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The hot stamping of high strength boron steels for producing com-
plex structural components of the car body-in-white is more and more
widespread, since the parts produced by this technology are charac-
terized by an excellent geometrical accuracy and an high strength to
weight ratio due to the simultaneous forming and quenching stages
they undergo during manufacturing.
The research work proposed in this thesis has a twofold objective: the
first is to develop a test procedure, reliable and repeatable, to identify
the specific global heat transfer coefficient between two surfaces in
contact. The second intent, based on the first one, is to qualify some
materials suitable for tools devoted to hot stamping, in order to make
the process more flexible, controllable and designable.
The introduction chapter presents the developed project, explaining
its industrial intent and the possible improvements related to a hot-
stamping process.
The second chapter consists in three sections. The first section, ded-
icated to the literature review, introduces the current hot stamping
technology, describes the stages of the industrial process, the materials
used, and some CAE (Computer-Aided Engineering) instruments, avail-
able in the design stage of the process. The second part shows the phys-
ical theories behind the general heat exchange and offers a traditional
approach to the study of mechanical contact, and physical phenom-
ena that occur, at the separation interface, between two solid bodies.
The case of unsteady conduction is treated introducing the model of
a simple body, with negligible internal resistance, surrounded by a
fluid, with the heat exchange occurring simultaneously for convection
and irradiation. The third section underlines the potentiality of using
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numerical simulations based on finite element analysis, for designing
hot stamping industrial processes. It also offers an overview of three
possible identification techniques, namely analogical, analytical and
inverse analysis, in order to obtain reliable parameters for the proper
calibration of virtual models.
The aim of the third chapter is to show the design and conduction
stages of the test developed for the identification of the heat transfer
coefficient. Several similar tests are available in literature, but even if
these tests were considered as guideline for their way to determine
reliable parameters, a dedicated test strategy is proposed in this work
to fit the peculiarity of the hot stamping process, with the main pur-
pose to make the final results serviceable in industry. The choice to
tightly link the laboratory test design to the industrial process comes
from the willingness to obtain results able to give accurate indications
on the possible development in the hot stamping process, such as the
development recently opened by the use of ceramic dies.
The fourth chapter is dedicated to the description of the HTC identi-
fication procedure by finite element inverse analysis, and to the pre-
sentation of obtained results. The developed identification procedure,
thanks to the availability of redundant input data, permits to immedi-
ately qualify the results and certify their reliability.
After the report of the results obtained with the electric analogy anal-
ysis, the fifth chapter offers a comparison between these results, the
inverse analysis results, and other literature results related to steel
dies.
The sixth, and conclusive, chapter reports a process FE simulation car-
ried out by using the identified HTC values. The simulation refers to
a generic hot-stamping industrial process without deformation using
dies made of partially stabilized zirconia. The geometric lay-out of the
simulation is almost the same as the one used in the identification
procedure; this identity allows to take advantage of several settings
of the FE analysis, already tested and validated. The main input data
of this simulation, that are HTC and the initial temperatures of sheets
and dies, are estimated through technological andmicrostructural con-
siderations that aim to make the simulation as close to the industrial
conditions as possible.
The presented work was carried out at DIMS and DIMAT labs, at Uni-
versity of Trento, from November 2006 to November 2009 under the
supervision of Prof. Paolo Bosetti.
Sommario
Il lavoro presentato in queste pagine ha come duplice scopo quello di
approntare una procedura di prova affidabile e ripetibile per la misura
del coefficiente di scambio termico superficiale globale specifico tra
due corpi e quello di ricercare e qualificare dei materiali idonei alla
produzione di utensili per lo stampaggio a caldo in grado di rendere
maggiormente flessibile e controllabile questo processo.
L’introduzione al lavoro si propone di mettere in risalto la rilevanza
industriale dello stesso, illustrando le possibili ricadute sul processo di
stampaggio a caldo e le prospettive di questa tecnologia. Nella prima
sezione (2.1) del secondo capitolo, dedicato alla ricerca bibliografica,
sono riportate le informazioni che riguardano lo stato dell’arte della
tecnologia dello stampaggio a caldo della lamiera, con la descrizione
del processo industriale, dei materiali usualmente impiegati e degli
strumenti CAE (Computer-Aided Engineering) disponibili in fase di pro-
gettazione del processo; la seconda Sezione (2.2) illustra le convenzioni
e le leggi fisiche che descrivono il fenomeno dello scambio termico tra
corpi: in questa sezione e` esposto un approccio tradizionale allo stu-
dio del contatto termo-meccanico e dei fenomeni fisici che avvengono
all’interfaccia tra due corpi. Lo studio della conduzione in regime non
stazionario e` affrontato presentando il caso semplice di un corpo con
resistenza interna trascurabile immerso in un fluido, col quale scambia
calore per convezione e irraggiamento. La terza Sezione (2.3) del sec-
ondo capitolo sottolinea le potenzialita` dell’utilizzo della simulazione
numerica con analisi agli elementi finiti nella progettazione dei pro-
cessi industriali (in particolare dello stampaggio a caldo della lamiera),
sottolineando l’importanza dell’inserimento di dati di input attendibili
per ottenere risultati affidabili. Proprio l’identificazione dei parametri
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di processo da inserire nelle simulazioni numeriche e` l’oggetto dei la-
vori presentati nella seconda parte di questa Sezione: l’identificazione
analitica, il metodo analogico, l’analisi inversa con le relative tecniche
di ottimizzazione sono metodologie di identificazione largamente uti-
lizzate.
Il terzo capitolo illustra la progettazione e la conduzione di un test per
la determinazione del coefficiente di scambio termico: altri test simili
sono proposti in letteratura per la determinazione del coefficiente di
scambio termico tra stampi e pezzo nel caso di lavorazioni massive
(forgiatura). Pur prendendo spunto da questi test e soprattutto dalle
linee guida dettate per renderli attendibili, la prova condotta in lab-
oratorio presenta numerosi accorgimenti studiati appositamente per
rendere i risultati del test attendibili anche industrialmente: la scelta di
fondo di vincolare la progettazione del test di laboratorio al processo
industriale e` dettata appunto dalla volonta` di ottenere dei risultati che
diano precise indicazioni sulle prospettive aperte alla tecnologia dello
stampaggio a caldo dall’impiego di stampi ceramici.
Il quarto capitolo e` dedicato alla descrizione della procedura di iden-
tificazione del HTC attraverso analisi inversa agli elementi finiti ed
alla presentazione dei risultati ottenuti. Questa metodologia di iden-
tificazione consente, grazie alla parziale ridondanza dei dati rilevati
durante i test, anche la qualificazione dei risultati ottenuti, la cui at-
tendibilita` puo` essere quindi valutata gia` in sede di analisi dei dati
rilevati.
Nel quinto capitolo, dopo aver presentato i risultati ottenuti sfrut-
tando l’analogia elettrica, questi vengono confrontati con quelli ot-
tenuti dall’analisi inversa e con quelli disponibili, per stampi in acciaio,
in letteratura.
Il sesto capitolo, che conclude il lavoro, riporta la simulazione di pro-
cesso condotta utilizzando i valori diHTC identificati: la simulazione e`
riferita ad un generico processo industriale, con l’utilizzo di stampi
in zirconia parzialmente stabilizzata. La configurazione geometrica
della simulazione si scosta di poco rispetto a quella utilizzata per
l’identificazione: in questo modo si possono sfruttare numerose im-
postazioni dell’analisi FE gia` collaudate e validate. I dati di input della
simulazione (essenzialmente temperatura della lamiera e degli stampi,
oltre ovviamente ad HTC) sono stimati attraverso considerazioni tec-
nologiche e microstrutturali che mirano a rendere la simulazione il piu`
possibile realistica.
vIl lavoro presentato e` stato condotto presso i laboratori del Diparti-
mento di Ingegneria Meccanica e Strutturale e di Ingegneria dei Mate-
riali dell’Universita` di Trento, dal mese di novembre del 2006 al mese
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1Introduzione
L’industria automobilistica e` da sempre, ed in particolare negli ultimi
anni, attenta alla sicurezza attiva e passiva dei veicoli; inoltre, negli ul-
timi duedecenni in specialmodo, e` notevolmente cresciuta l’attenzione
del mercato riguardo la riduzione dei consumi, fermo restando il liv-
ello delle prestazioni (inteso come velocita` ed accelerazione, ma anche
come comportamento dinamico, spazio d’arresto, ecc . . . ), irrinuncia-
bili in un mondo in cui la velocita` di spostamento aumenta di pari
passo con lo sviluppo di ogni tipo di attivita` umana.
Velocita`, bassi consumi, sicurezza: queste le parole che sintetizzano gli
obiettivi odierni dei grandi costruttori di auto. L’evoluzione tecnolog-
ica ha visto un aumento molto importante dell’utilizzo dell’elettronica
e di recente anche dell’informatica per migliorare le prestazioni dei ve-
icoli, ma anche dal punto di vista meccanico i passi fatti sono notevoli.
L’impiego di materiali sempre piu` leggeri e sempre piu` robusti ha
permesso la riduzione del peso dei veicoli, con conseguente ricaduta
positiva sulle prestazioni dinamiche e sui consumi, e parallelamente
l’aumento della sicurezza sia attiva (miglior comportamento dinam-
ico) che passiva (scocche a deformabilita` programmata in primis).
Tra questi materiali robusti e leggeri vi sono leghe di magnesio e allu-
minio e acciai speciali: generalmente, questi materiali sono acquistati
dall’industria automobilistica in forma di lamiera, che viene poi lavo-
rati nei modi piu` opportuni per conferirvi forma e proprieta` desiderati.
In questo contesto ha iniziato a prendere piede lo stampaggio a caldo e
a tiepido della lamiera, necessario per poter lavorare le leghe dimagne-
sio ed alluminio a temperature in cui questi materiali hanno sufficiente
lavorabilita` per deformazione plastica.
Lo sviluppo dello stampaggio a caldo ha suggerito un suo impiego
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anche per la lavorazioni di altri materiali, ad esempio l’acciaio al boro
rivestito: le lamiere di questo materiale, stampate a caldo e raffreddate
in stampo, modificano la loro microstruttura e offrono a fine lavo-
razione eccellenti proprieta` meccaniche a fronte di un peso relativa-
mente contenuto.
Il presente lavoro si propone di esplorare una nuova frontiera dello
stampaggio a caldo: il controllo della velocita` di raffreddamento in
stampo. Ad oggi il processo e` finalizzato alla produzione unicamente
di componenti amicrostruttura completamentemartensitica: la proget-
tazione mira ad ottenere elevate velocita` di raffreddamento in stampo,
con l’adozione di stampi in acciaio, spesso anche raffreddati permiglio-
rare l’estrazione di calore dal pezzo in lavorazione. Lo sviluppo, abbas-
tanza recente, di materiali ceramici dalle elevatissime proprieta` mecca-
niche e dalle proprieta` termiche sensibilmente diverse rispetto a quelle
dell’acciaio, ha suggerito un’indagine riguardo la possibilita` di utiliz-
zare stampi inmateriale ceramico e riguardo la ricaduta di questa scelta
sulla velocita` di raffreddamento del pezzo. Una delle prospettive che
si possono prefigurare e` la creazione di stampi in acciaio con inserti
ceramici, in grado di eseguire una tempra differenziale del pezzo in
lavorazione e conferire allo stesso dei gradienti microstrutturali.
Nel seguito di questo lavoro si fara` riferimento al processo di stam-
paggio a caldo di lamiere in acciaio al boro 22MnB5, in particolare
all’acciaio rivestito sviluppato da Arcelor e noto col nome commer-
ciale di Usibor 1500P R©. Questa lamiera e` composta da un bulk interno
di acciaio al boro e da un rivestimento di ossido di alluminio e silicio
dello spessore minimo di 20µm: grazie alla presenza del rivestimento
l’ossidazione a caldo della lamiera e` notevolmente ridotta, cosı` da
permettere l’ottenimento a fine stampaggio di un manufatto estetica-
mente bello e di finitura adeguata, senza bisogno di ulteriori riprese a
macchina utensile.
1.1 Il caso industriale
Le tecnologie di stampaggio a caldo e tiepido di prodotti laminati
hanno subito negli ultimi anni un notevole sviluppo, grazie alle loro
potenzialita` nella lavorazione sia di laminati in leghe non tradizionali
(leghe di magnesio in primo luogo), sia di lamiere ferrose. Il processo
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di stampaggio a caldo prevede il riscaldamento della lamiera, il man-
tenimento in temperatura, il trasferimento (il piu` rapido possibile) in
stampo ed infine la formatura del pezzo con contemporaneo raffred-
damento.
I parametri del processo, scelti in base al materiale lavorato e alle carat-
teristiche desiderate del pezzo finito, sono: temperatura di riscalda-
mento; tempo di mantenimento in temperatura; decadimento termico
durante il trasferimento in stampo; decadimento termico in stampo.
La temperatura di riscaldamento e` scelta in base alla motivazione
dell’impiego dello stampaggio a caldo: per le leghe di magnesio, poco
duttili a temperatura ambiente, si sfrutta una finestra di alta formabilita`
della lega in corrispondenza dei 400 ◦C,mentre per le leghe ferrose, che
subiscono un importante trattamento termico in stampo, la temper-
atura di riscaldamento e` corrispondente a quella di austenitizzazione
(circa 900 ◦C). Il tempo di mantenimento in temperatura e` il minimo
sufficiente all’omogeneizzazione termica e dipende quindi dalle pro-
prieta` termiche della lamiera (sia delmateriale che geometriche) e dalle
caratteristiche del forno.
Il decadimento termico durante trasferimento e` un effetto collaterale
del processo, che si tende a minimizzare sia con trasferimenti molto
rapidi che con l’adozione di altri sistemi (capsule termiche o altro). Nel
caso delle leghe ferrose come in quello delle leghe alternative e` impor-
tante che la formatura in stampo avvenga alla giusta temperatura, nel
primo caso per evitare mutamenti di fase non controllati, nel secondo
per sfruttare la giusta finestra di lavorabilita` del materiale.
Attraverso lo stampaggio a caldo si producono componenti di geome-
tria anche piuttosto complessa, sotto condizioni termomeccaniche di
interazione stampo-lamiera che variano localmente in modo marcato:
per questo motivo l’approccio al problema termico del raffreddamento
da affrontare in sede di progettazione del processo avviene attraverso
analisi FE. Questo tipo di analisi ha come obiettivo la ricostruzione
dell’evoluzione nel tempo del campo termico dello stampo e del pezzo
a partire dalla conoscenza delle grandezze termiche e meccaniche che
descrivono le condizioni iniziali in cui vengono a contatto. Tra le vari-
abili di input da inserire per ottenere una corretta simulazione (e pro-
gettazione) del processo, particolarmente importante e` il coefficiente
di scambio termico superficiale ( o heat transfer coefficient, HTC). Questo
parametro quantifica la potenza termica trasmessa attraverso la super-
ficie di separazione tra due corpi rispetto all’unita` di superficie e ad
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una differenza di temperatura tra le due superfici a contatto unitaria.
In una simulazione del processo di stampaggio, in cui il pezzo e` in con-
tatto completo con lo stampo, la conoscenza dell’ HTC, delle proprieta`
termiche e meccaniche dei materiali di stampo e pezzo sono necessarie
per prevedere l’evoluzione reale del processo ed intervenire per con-
trollarlo.
1.2 L’identificazione del HTC
La determinazione del coefficiente di scambio termico e` di partico-
lare interesse industriale dopo il recente sviluppo delle tecnologie di
stampaggio a caldo e/o tiepido utilizzate per stampare leghe leggere,
ultraleggere ed acciai altoresistenziali. Nello stampaggio tradizionale,
i trattamenti termici seguono la formatura ed avvengono utilizzando
comemezzo di estrazione del calore un fluido, sia esso aria (compressa
o meno), oppure un liquido (acqua, olio, ecc.). Il progettista che si
occupa di ottimizzare il trattamento termico, dispone di dati ottenuti
attraverso l’esecuzione di prove che vengono effettuate in condizioni
normate (ad esempio la ISO 9950 e laASTMD6200-97). Tali condizioni,
nel caso del raffreddamento in fluido, fissanomateriale e geometria del
pezzo, temperatura del fluido, grado di agitazione del bagno, ecc. .
Il raffreddamento a contatto solido, al contrario di quello a bagno
in mezzo fluido, e` scarsamente studiato e non ancora normato. Il
parametro che descrive l’estrazione di calore dal pezzo, a parita` di
proprieta` termiche e meccaniche del pezzo stesso e del mezzo raf-
freddante, sia nel caso di mezzo fluido che solido, e` il coefficiente di
scambio termico globale superficiale (HTC). Tale parametro di pro-
cesso dipende fortemente dalle condizioni di contatto, quali il grado
di agitazione per il mezzo fluido e le caratteristiche geometriche e mi-
crogeometriche delle superfici a contatto per il mezzo solido. Pertanto,
anche nel caso di raffreddamento a contatto solido e` opportuno indi-
viduare una procedura di test che sia ripetibile e che permetta un buon
controllo delle condizioni di prova, cosı` da poter replicare fedelmente
le condizioni industriali e ottenere cosı` risultati maggiormente affid-
abili nella determinazione del HTC.
I lavori presenti in letteratura in quest’ambito, indagano il processo
di stampaggio nel suo stato dell’arte, mentre col presente si avan-
zano proposte di differenziazione del processo per una sua maggior
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flessibilita` ed un suo maggiore e migliore controllo: qualificare mate-
riali diversi dal tradizionale acciaio impiegato nella costruzione degli
stampi e` l’obiettivo del lavoro. La presenza in commercio di materiali
ceramici dalle ottime prestazionimeccaniche rappresenta una frontiera
tecnologica chepuo` essere sfruttata inmodoestremamente interessante
nel processo di stampaggio a caldo della lamiera.
1.3 L’obiettivo e l’organizzazione del lavoro
Il presente lavoro e` stato concepitoperperseguiredueobiettivi: il primo
e` quello di definire una procedura sperimentale, semplice e affidabile,
per la determinazione del coefficiente di scambio termico superficiale
tra stampo e lamiera durante il processo dello stampaggio a caldo.
Il secondo e` quello di individuare dei materiali per la costruzione di
stampi che permettano di sfruttare il processo di stampaggio a caldo
delle lamiere in acciaio per la produzione di pezzi con gradienti mi-
crostrutturali (con zone del pezzo completamente martensitiche ed
altre con microstruttura piu` dolce).
Il lavoro presentato tratta nella sua parte iniziale dell’attuale stato
dell’arte: vengono presentati il contesto industriale dello stampaggio
a caldo, la sua progettazione, le modalita` di conduzione con gli aspetti
tecnologici piu` rilevanti, il prodotto finito e le sue caratteristiche. Colta
l’importanza di conoscere ilHTC per ottimizzare il processo d stampo,
vengono illustrati i concetti e le leggi fisiche principali per la compren-
sione del fenomeno dello scambio termico. In conclusione del secondo
capitolo e` riportata una sintesi dei principali lavori che hanno come
obiettivo l’identificazione di parametri di processo, in particolar modo
del coefficiente di scambio termico superficiale.
Nel terzo capitolo e` descritta la prova sperimentale: materiali testati,
apparecchiatura di misura e di prova, piano sperimentale vengono
presentati ponendo particolare attenzione agli accorgimenti tecnici che
rendono i risultati del test attendibili. I dati rilevati nel corsodella prova
vengono processati per determinare il HTC secondo due tecniche di-
verse: la prima, piu` laboriosa, si basa sull’analisi inversa agli elementi
finiti, mentre la seconda, piu` grezza, sfrutta il metodo analogico per lo
studio del problema termico. I risultati delle identificazioni condotte
con le due tecniche vengono messi a confronto tra di loro e, ove possi-
bile, confrontati con i dati sull’HTC disponibili in letteratura.
6 1 Introduzione
Infine e` presentata una simulazione del processo di stampaggio a caldo
condotta basandosi sui risultati ottenuti nel lavoro: questa simulazione
si propone di capire e dimostrare come l’impiego di stampi in mate-
riale ceramico, e particolarmente in zirconia parzialmente stabilizzata
(zirconia p.s.), offre la possibilita` di ottenere, in modo controllato, com-
ponenti a microstruttura non martensitica.
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Nei prossimi paragrafi sono riassunti dei lavori che descrivono il pro-
cesso di stampaggio a caldo e lo studiano, in particolare dal punto di
vista termico. In questi lavori si trovano indicazioni sui parametri di
controllo del processo, sulle strategie di conduzione, le leggi fisiche che
lo regolano e le tecniche per individuarle.
Dopo la descrizione del processo, e` proposto lo studio del fenomeno
di scambio di calore tra due corpi solidi e le attuali tecniche di sim-
ulazione numerica (basate sull’analisi agli elementi finiti FEA) delle
quali il progettista si avvale per prevedere l’evolvere del processo e le
caratteristiche del pezzo finito.
Infine sono presentate le tecniche di identificazione dell’ HTC in con-
dizioni simili a quella considerata, riconducendo le metodologie a due
classi fondamentali: la misura indiretta attraverso risoluzione analitica
del problema semplificato e identificazione del parametro attraverso
analisi inversa agli elementi finiti.
2.1 Lo stampaggio a caldo della lamiera
L’adozione di lavorazioni per deformazione plastica coincide, o forse
addirittura anticipa secondo alcuni, la nascita della metallurgia, della
quale le testimonianze piu` antiche (risalenti all’ottavo millennio prima
di Cristo) si sono ritrovate in Anatolia, dove vi sono chiari segni di
operazioni di fusione del rame [1]. A quest’epoca, in cui e` fiorita la
rivoluzione neolitica dell’agricoltura, risalgono anche le prime lavo-
razioni plastiche dei materiali nativi (oro, argento, rame, ma anche
ferro meteoritico): si trattava per lo piu` di martellature, rudimentali
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operazioni di forgiatura fatte prima a freddo e in seguito a caldo.
Da allora la tecnologia di lavorazione dei metalli e` progredita in modo
piuttosto lento fino alla rivoluzione industriale, durante la quale la
tecnologia messa al servizio delle conoscenze teoriche ha permesso lo
sviluppo di nuovi macchinari e nuove tecniche di lavorazione.
La lavorazione per deformazione plastica della lamiera, nota e prati-
cata gia` da molto tempo, si propone a partire dagli anni ottanta del
novecento come uno dei settori dell’industria di base in maggiore
espansione. Cio` si deve allo sviluppo dell’automazione, cui la lavo-
razione della lamiera si presta agevolmente, che rende i manufatti in
lamiera stampata decisamente competivi sul mercato rispetto a quelli
prodotti con altre tecnologie [2] (fonderia, lavorazioni per asportazione
di truciolo, forgiatura massiva, ecc. . . ).
2.1.1 L’industria automobilistica
I prodotti in lamiera stampata a caldo sono destinati in gran parte
all’industria del trasporto, particolarmente al comparto automobilis-
tico, da sempre protagonista delle piu` significative innovazioni nelle
tecnologie dei processi di formatura della lamiera [3]. Gli obiettivi di
tale industria, a partire dallameta` degli anni novanta in avanti, sono [4]:
• riduzione dei consumi e dell’impatto ambientale: ottenuta, oltreche´
attraverso il miglioramento della meccanica del veicolo, attraverso
la riduzione del peso del veicolo stesso, senza pregiudicarne si-
curezza ed funzionalita`;
• aumento di sicurezza attiva del veicolo: ottenuta anche attraverso
l’irrigidimento del telaio;
• aumento di sicurezza passiva del veicolo: ottenuta anche grazie
all’adozione di elementi a deformabilita` programmata per la scocca;
• incremento degli standard qualitativi: ottenuta aumentando la pre-
cisione e l’accuratezza dei singoli componenti (stampati), per facil-
itare un assemblaggio rapido, economico e affidabile.
La riduzione del peso e l’aumento della resistenza meccanica dei
componenti del telaio sono possibili attraverso l’utilizzo di leghe leg-
gere ed ultraleggere (largamente utilizzate sono le leghe di magnesio e
di alluminio [6]) e di acciai alto-resistenziali. A fronte delle loro ottime
caratteristiche meccaniche questi materiali risultano, a freddo, poco
formabili ed affetti da un significativo ritorno elastico, che condiziona
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Fig. 1. Range of application for hot stamped USIBOR 1500 P in crash relevant components 
Although USIBOR 1500 P has a quite good formability at room temperature, the blank is 







Fig. 2.1. Visualizzazione dei componenti della scocca di un veicolo prodotti in acciaio al boro
stampato a caldo. Imm gine adatta a da [5]
l’accuratezza e la precisione geometrica del pezzo finito [5], nonche´ di
difficile lavorazione, a causa dei carichi sugli stampi e della loro con-
seguente elevata usura.
La tecnologia di produzione basata sullo stampaggio a caldo [7, 8]
riduce di molto gli svantaggi elencati: le leghe leggere inoltre, a tem-
perature di 400-500 ◦C, hanno buona deformabilita`, offrono minor re-
sistenza meccanica alla formatura e hanno comportamento piu` duttile,
consentendo deformazioni plastiche maggiori e determinando un mi-
nor ritorno elastico [9–11] .
Il processo chevienepresentatonelle seguenti sezioni e` quello riguardante
lo Usibor 1500P R© sotto forma di lamiera dello spessore di 1.5mm,
che essendo il materiale piu` largamente impiegato dall’industria au-
tomobilistica su scala mondiale [12], e` stato scelto come materiale di
riferimento per questo lavoro di tesi.
2.1.2 Il processo
Nel processo considerato, i fogli di lamiera vengono riscaldati fino oltre
la temperatura di austenitizzazione (ca. 900 ◦C) e poi trasferiti in una
pressa dove simultaneamente raffreddano e subiscono la formatura.
Questa tecnica di lavorazione della lamiera e` utilizzata per produrre
componenti con microstruttura martensitica [13, 14], ottenuta grazie
alle elevate velocita` di raffreddamento che si raggiungono utilizzando
stampi in acciaio, spesso anche raffreddati [15].
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Il forno di riscaldamento, generalmente con due aperture distinte per
il carico e lo scarico cosı` da permettere la continuita` delle operazioni, e`
collocato nelle immediate vicinanze della pressa per ridurre al minimo
il tempo di trasferimento dei fogli caldi in stampo: in questo modo,
oltre a innalzare la temperatura di formatura, si riduce l’ossidazione a
caldo dei fogli esposti in aria. L’operazione di caricamento del forno
e di trasferimento in stampo puo` essere manuale, semiautomatica o
automatica a seconda delle esigenze e delle disponibilita` aziendali.
Fig. 2.2. Schematizzazione del processo standard automatizzato in cui si colloca lo stampaggio
a caldo della lamiera.
Durante il trasferimento dal forno allo stampo, il foglio di lamiera
subisce un abbassamento di temperatura di circa 200 ◦C, scambiando
calore con l’ambiente circostante essenzialmente per irraggiamento [5].
La formatura avviene partendo da una temperatura di chiusura degli
stampi di circa 700 ◦C. La lamiera subisce in stampo la deformazione
plastica che le conferisce la geometria desiderata, e contemporanea-
mente si raffredda per essere rimossa dallo stampo ad una temper-
atura di circa 150 ◦C, a trasformazioni metallurgiche completamente
avvenute [5]. Il processo, dall’istante in cui il foglio di lamiera viene
estratto dal forno all’istante in cui gli stampi si aprono e il pezzo finito
viene rimosso, dura tra i 20 s ed i 30 s, a seconda della geometria del
pezzo stampato [5].
Le presse impiegate sono quelle tradizionali per lo stampaggio a
freddo, di tonnellaggio vario a seconda delle esigenze, mentre per i
dettagli riguardanti gli stampi si rimanda alla Sezione 2.1.5. Il ciclo
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termo-meccanico a cui e` sottoposto il materiale durante un’operazione
di stampaggio a caldo e` rappresentato in Figura 2.3.
Fig. 2.3. Rappresentazione delle operazioni fondamentali del processo e del ciclo termico
applicato alla lamiera in lavorazione.
2.1.3 I parametri di processo
Per parametri di processo si intendono i fattori, piu` o meno controlla-
bili, che influenzano direttamente il risultato del processo di stampag-
gio a caldo. In questa sede, l’interesse e` focalizzato sul ciclo termico
subito dal componente in forno, durante il suo trasferimento in pressa
e durante la formatura in stampo. I parametri di processo considerati
sono [16]:
• velocita` di riscaldamento in forno;
• temperatura di austenitizzazione;
• raffreddamento durante il trasferimento dal forno allo stampo;
• temperatura di “primo contatto ”;
• velocita` di raffreddamento in stampo.
I primi due parametri sono facilmente controllabili: la velocita` mas-
sima di riscaldamento del pezzo e` di 12Ks−1, per evitare il deteriora-
mento del rivestimento della lamiera, e la temperatura di austenitiz-
zazione, da mantenere per 5-10min secondo le dimensioni del foglio
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lavorato e le caratteristiche del forno, e` di 850-950 ◦C, la minima per
garantire la trasformazione di fase in tutto il pezzo in tempi ridotti [17].
Il terzo parametro, la velocita` di raffreddamento durante il trasferi-
mento dal forno alla postazione di stampaggio, non puo` essere control-
lato in modo diretto. Si tende a minimizzare il tempo di trasferimento,
cosı` da non indurre trasformazionimicrostrutturali nella lamiera prima
che essa venga in contatto con lo stampo.
La temperatura di “primo contatto”e` diretta conseguenza del raffred-
damento durante trasferimento. La conoscenza di questo parametro
ed il suo controllo sono di fondamentale importanza sia per quanto
detto riguardo le trasformazioni microstrutturali sia per simulare
correttamente il processo, in quanto la temperatura di “primo con-
tatto”individua l’intervallo di temperatura entro il quale vanno defi-
nite le proprieta` termiche e meccaniche dei materiali.
La velocita` di raffreddamento in stampo determina la microstruttura
finale del componente: dipende dal coefficiente di scambio termico
globale HTC tra stampo e pezzo in lavorazione, dalle proprieta` ter-
miche della lamiera, dalla geometria e dal materiale dello stampo.
2.1.4 Il 22MnB5
Affinche´ il processo di stampaggio a caldo dia risultati soddisfacenti, e`
molto importante disporre di lamiere in materiale idoneo. Negli anni
sono stati sviluppati materiali che limitano considerevolmente gli in-
convenienti che lo stampaggio a caldo puo` comportare (ossidazione a
caldo, prima di tutto) ed esaltano i vantaggi (tempra in stampo su tutti)
connessi al processo.
Il materiale maggiormente impiegato nel processo, ad oggi, e` il
22MnB5: in condizionidi forniturapresentaunamicrostruttura ferritico-
perlitica ed e` caratterizzato da una tensione ultima UTS di circa
600MPa. La temprabilita` del materiale consente, dopo stampaggio, di
ottenere un prodotto con tensione ultima UTS di circa 1500MPa. Di se-
guito sono riportate la composizione chimicadel 22MnB5 (Tabella 2.1.4),
mentre le proprieta` termiche e meccaniche principali del materiale
scelto per i test sono riportate nel prossimo capitolo.
Lapresenzadel boro, anche inpercentualiminime, limita l’accrescimento
del grano cristallino ad elevata temperatura e conferisce al materiale
ottime attitudini di tempra.
Per evitare l’ossidazione a caldo durante l’esposizione in aria nel corso
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C Mn Si Cr Ti B
0.25 1.40 0.35 0.30 0.05 0.005
Table 2.1. Composizione chimica del 22MnB5, [12]
del trasferimento dal forno alla pressa, le lamiere da stampaggio a
caldo sono rivestite con uno strato di ossidi che proteggono il materi-
ale e migliorano la finitura del pezzo, eliminando cosı` le operazione
post-stampaggio di rimozione di ossidi in forma di scaglia (sabbiatura
o altro). I rivestimenti possono essere di vario tipo, e sono brevettati
dalle aziende che li producono [12]
2.1.5 Gli stampi
Nel processo di stampaggio a caldo la progettazione dello stampo e` di
fondamentale importanza, in quanto buona parte del costo del pezzo
finito dipende dal costo degli stampi. Lo stampo deve essere lavora-
bile in modo relativamente facile alle macchine utensili e garantire la
possibilita` di compiere un elevato numero di operazioni di stampaggio
senza subire alterazioni di forma.
Adoggi, gli stampi sonoprodotti in acciaio inox, secondo leprescrizioni
della normativa AISI h11 (Stati Uniti) edUNI EN ISO 4957 (per l’Italia):
devono garantire buona resistenza all’ossidazione, elevata resistenza
meccanica a caldo, resistenza agli shok termici ed alla fatica termica.
Queste caratteristiche sono ottenute limitando la concentrazione di car-
bonio (<0.4 % ) ed aggiungendo il vanadio che mantiene le dimensioni
del grano ridotte anche ad elevate temperature.
Attualmente il processo di stampaggio a caldo della lamiera mira alla
tempra in stampo, pertanto la preoccupazione del progettista e` quella
di ottenere un raffreddamento rapido ed omogeneo in ogni regione
dello stampo. Per situazioni particolari, in cui una parte dello stampo
si surriscalda eccessivamente impedendo alla porzione di pezzo a con-
tatto con essa di raffreddarsi inmodo sufficientemente rapido, si ricorre
ad raffreddamento forzato attraverso l’adduzione di liquido in appositi
canali di raffreddamento interni allo stampo [18].
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2.2 Lo scambio termico
Lo scambio di calore tra pezzo e stampi durante il processo di stam-
paggio a caldo e` un problema termico in regime non stazionario. Il
suo studio richiede la conoscenza dei meccanismi di trasmissione del
calore, delle proprieta` termiche dei materiali e delle soluzioni delle
equazioni differenziali che descrivono situazioni di questo tipo per
casi geometricamente semplici e con condizioni al contorno definite in
modo rigoroso.
Il calore e` quella forma di energia che si manifesta nel passaggio da
un corpo ad un altro quando tra i due vi e` differenza di temperatura.
Il primo principio della termodinamica stabilisce l’equivalenza delle
varie forme di energia; il secondo fissa il senso del trasferimento spon-
taneo di calore: da corpo a temperatura elevata a corpo a temperatura
piu` bassa. Il fenomeno del trasferimento di calore interessa il mondo
fisico in generale, dalla vita quotidiana ai vari settori della tecnica,
spesso manifestandosi come effetto collaterale di fenomeni fisici che
coinvolgono altre forma d’energia.
La comprensione completa dei fenomeni di scambio di calore necessita`
della conoscenza del comportamento dei corpi e dei materiali rispetto
al trasferimento di calore: ciascun materiale ha delle diverse proprieta`
di assorbimento e di trasporto interno di calore, che determinano non
solo le modalita` e l’entita` del trasferimento di calore, ma anche il con-
seguente campo termico del corpo stesso.
Negli anni 50 e 60 del secolo scorso, prima dell’avvento dei computer
digitali, i fenomeni di scambio termico e trasmissione del calore sono
stati ampiamente studiati attraverso lo studio di circuiti elettrici: il par-
allelismo formale con leggi e grandezze dei sistemi elettrici consente
una risoluzione del problema termico semplificata a parametri concen-
trati, che di fatto e` una prima applicazione del metodo delle differenze
finite, largamente utilizzato nei programmi di risoluzione numerica di
problemi termici [19, 20].
2.2.1 Conduzione, convezione, irraggiamento
I modi di trasmissione del calore sono riconducibili a tre categorie [21]:
conduzione, convezione e irraggiamento. Spesso i tre modi sono con-
comitanti.
La conduzione termica, che si manifesta a livello macroscopico come
scambio di calore senza movimento apparente di materia, e` dovuta
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alla cessione di energia cinetica da parte di molecole, in zona ad alta
temperatura, a quelle in zona a piu` bassa temperatura. Nei metalli,
si aggiunge all’energia molecolare anche quella elettronica dovuta ap-
punto al movimento degli elettroni: per questo i metalli sono dei buoni
conduttori di energia termica.
La legge di Fourier definisce il coefficiente di conduttivita` termica per
il materiale isotropo ed omogeneo costituente una parete, le cui due su-
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dove:
Q: calore trasmesso;
K: conducibilita` termica, W/m/K;
A: area della superficie di contatto tra stampo e pezzo, m2;
T1: temperatura della superficie piu` calda, K;
T2: temperatura della superficie piu` fredda, K.
Il valore della conduttivita` termica varia dai 0.007 W/m/K per i gas
con elevata massa molecolare fino ai 440W/m/K dell’argento, dipende
dalle condizioni di pressione e temperatura, ma rimane una proprieta`
propria della sostanza, indipendente quindi dagli altri termini delle
2.1 e 2.2.
La convezione termica consiste nel trasporto del calore che si attua in
presenza dimovimentomacroscopico relativo di particelle di un fluido
che lambisce la superficie di un corpo solido. Il trasporto di calore dalla
superficie al fluido (o viceversa) e` descritto in termini di flusso dalla
relazione di Newton (1701):
q = αA (T1 − T2) (2.3)
dove:
Q: calore estratto dal pezzo;
α: coefficiente di scambio termico specifico, W/m2/K;
A: area della superficie di contatto tra stampo e pezzo, m2;
T1: temperatura superficiale del corpo solido, K;
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T2: temperatura del fluido, K.
L’analogia tra la relazione di Fourier ( 2.2), che riguarda il movimento
di calore all’interno di un corpo solido, e la relazione di Newton ( 2.3),
che riguarda il movimento di calore tra un corpo solido e un fluido
e` evidente. Va pero` sottolineata una sostanziale differenza: mentre il
termine k che compare nella 2.2 e` una proprieta` del materiale, il ter-
mine α che compare nella 2.3 non e` una proprieta` del fluido, ma delle
condizioni di deflusso.
La trasmissione del calore per irraggiamento avviene per propagazione
di onde elettromagnetiche, analogamente alla propagazione della luce.
Si ha trasmissione per irraggiamento nel vuoto o attraverso sostanze
trasparenti (almeno in parte). Il flusso di energia radiante emesso (non
scambiato, si noti) da un corpo nero (radiatore integrale) a temperatura
assoluta T si esprime attraverso la relazione di Stefan Boltzmann:
q = σn A T4 (2.4)
In letteratura si trovanonumerosi studi riguardanti lo scambiodi calore
per convezione e irraggiamento di un corpo solido immerso in un
mezzo fluido. I termini delle equazioni 2.3 e 2.4 possono essere oppor-




= HTC(T1 − T2) (2.5)
Il termine HTC rappresenta l’inverso delle resistenza termica super-
ficiale specifica, che e` un parametro dipendente dalle composizione
e condizioni di deflusso del mezzo fluido (per la sua componente
convettiva) e dalla temperatura (per la sua componente radiante).
Questo parametro, poco utile nello studio teorico dei problemi ter-
mici, risulta talvolta particolarmente utile in problemi pratici comp-
lessi per riassumere in quest’unico termine una serie di fattori difficil-
mente computabili singolarmente che intervengono nel trasferimento
di calore [21].
2.2.2 Le proprieta` termiche dei materiali
Come visto nelle equazioni 2.2 e 2.2, la quantita` di calore scambiata
tra due corpi e` proporzionale alla differenza di temperatura tra le due
superfici affacciate dei corpi. Tale differenza di temperatura varia nel
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tempo man mano che i corpi scambiano calore in modo significativa-
mente condizionato dalle proprieta` termiche dei corpi stessi, in parti-
colare dalla conducibilita` termica specifica (ks, W/m/K) e dalla capacita`
termica specifica (Cs, J/Kg/K).
La quantita` di calore posseduta da un corpo ad una data temper-
atura dipende dalla sua capacita` termica: tale grandezza equivale alla
quantita` di calore da fornire al corpo affinche´ esso aumenti la sua
temperatura di 1K. Per ciascun materiale, la capacita` termica specifica
e` definita come la quantita` di calore da fornire ad 1Kg di materiale
affinche´ esso aumenti la sua temperatura di 1K. A parita` di tutte le al-
tre proprieta` termiche, un corpo con maggior capacita` termica esposto
a una certa quantita` di calore assorbe il calore in modo piu` rapido
rispetto ad uno con capacita` termica minore.
La quantita` di calore trasmessa per unita` di tempo, per unita` di su-
perficie trasversale, per unita` di spessore dello strato e per differenza
di temperatura unitaria all’interno di un materiale omogeneo si dice
conducibilita` termica specifica del materiale, si indica con la lettera k
e ha come unita` di misura nel SI il W/m/K. A parita` di tutte le altre
proprieta` termiche, un corpo con maggior conducibilita` termica speci-
fica esposto a una certa quantita` di calore assorbe il calore in modo piu`
rapido rispetto ad uno con capacita` termica minore [21, 22].
2.2.3 Conduzione termica in regime variabile
In questa Sezione si tratta la conduzione termica in regime variabile
non periodico: in particolare, verra` presentato il caso del corpo con
resistenza interna trascurabile immerso istantaneamente in un fluido a
temperatura diversa con il quale scambia calore attraverso convezione
e irraggiamento. Un corpo puo` considerarsi a resistenza interna nulla,
con campo termico uniforme entro il 5% quando il suo numero di Biot
e` minore di 0.1. La trattazione di questo caso offre numerosi spunti per
affrontare il problema dello scambio termico tra stampi e pezzo nello
stampaggio a caldo della lamiera.
Ti e` la temperatura iniziale del corpo, di volume V e superficie di
scambio termico A; all’istante t0 il corpo viene immerso in un fluido
a temperatura T f . Dal punto di vista matematico, questa situazione si
descrive come una variazione a gradino delle condizioni al contorno.
La soluzione del problema consiste nel calcolare la temperatura T (uni-
forme) del corpo, variabile nel tempo. Si puo` scrivere:
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α A (T f − T) = Cs ρ V dT (2.6)
dove il prodotto ρV rappresenta la massa del corpo e gli altri sim-
boli hanno il significato spiegato nelle Sezioni precedenti. Supponendo
costanti nel tempo e rispetto alla temperatura i valori dei parametri α,
c, ρ, si possono separare le variabile temperatura e tempo e scrivere
un’equazione la cui soluzione e`:
T f − T = (T f − Ti) e−(α A/Cs/ρ/V) t (2.7)
O in una forma alternativa:





La costante τ0 rappresenta, fisicamente, il tempo necessario affinche´ il
corpo raggiunga la temperatura T f nel caso in cui la velocita` di vari-
azione rimanesse quella iniziale, o anche il tempo necessario affinche´
la temperatura del corpo varii del 63.2% della totale escursione finale
(T f − Ti) [23].
2.2.4 Il contatto termo-meccanico
Lo scambio termico tra due superfici a contatto dipende strettamente
dalla morfologia del contatto stesso [24]. La superficie nominale di
contatto si divide in due tipologie di regioni:
• regioni a contatto;
• regioni non a contatto;
L’entita` di tali regioni dipende dalla microgeometria istantanea delle
superfici a contatto [25], a sua volta determinata dalla rugosita` super-
ficiale dei corpi a contatto e dalla pressione locale di contatto. Nelle
regioni a contatto, la resistenza termica superficiale e` nulla e il prob-
lema termico si puo` ricondurre alla risoluzione dell’equazione della
conduzione cui si impone una variazione a gradino delle condizioni al
contorno, in questo caso imposte sulla temperatura superficiale. Nelle
regioni non a contatto lo scambio termico avviene per convezione e
irraggiamento: la distanza media tra le porzioni di superfici non a
contatto e` pari alla somma delle rugosita` istantanee Rz di ciascuna
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superficie, e l’entita` di tale distanza determina la predominanza di un
meccanismo di trasmissione rispetto ad un altro. La rugosita` istantanea
Rz dipende a sua volta dalla rugosita` misurata, dalla durezza superfi-
ciale e dalla pressione di contatto.
Si puo` dunque affermare che tra due corpi di materiale dato posti a
contatto lo scambio di calore e` proporzionale alla pressione di contatto
e all’inverso della somma delle rugosita` Rz delle superfici [26].
2.2.5 Il coefficiente di scambio termico globale specifico apparente
Come visto nella Sezione 2.2.1 nel caso dell’equazione 2.5 per la re-
sistenza termica superficiale specifica, anche nel caso di due corpi solidi
a contatto si possono considerare globalmente i fenomeni di trasmis-
sione del calore alla superficie d’interfaccia tra i due corpi, ed esprimere
il trasferimento di calore da un corpo all’altro attraverso l’equazione:
q
A
= HTC (T1 − T2) (2.10)
dove il termine HTC (Heat Transfer Coefficient) si dice coefficiente di
scambio termico globale apparente specifico, si esprime inW/m2/K ed
e` proporzionale al rapporto tra il flusso termico specifico e il potenziale
termodinamico, ossia la differenza di temperatura tra le superfici.
IlHTC e` un parametro complessivo in cui i contributi alla trasmissione
del calore di conduzione, convezione e irraggiamento si sommano.
L’entita` di ciascun contributo dipende dalla morfologia del contatto,
descritta nella Sezione 2.2.4.
Durante il processo di stampaggio a caldo della lamiera, i parametri
che influenzano ilHTC possono essere raggruppati in tre categorie [5]:
• parametri di processo: pressione di contatto, temperature iniziali
dei corpi;
• condizioni d’interfaccia: rugosita`, macro e micro geometria, pre-
senza di lubrificante o di impurita`;
• proprieta` dei materiali: caratteristiche reologiche, proprieta` ter-
miche.
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2.3 L’identificazione dei parametri per la simulazione
del processo
Il recente sviluppo dell’informatica e il rinnovato interesse per le tec-
niche di calcolo numerico hanno reso possibile negli ultimi 20 anni
lo sviluppo di programmi che permettono di modellare i processi in-
dustriali e di simularne l’evoluzione [27]. Questi programmi vengono
utilizzati per la progettazione dei processi industriali al fine di limitare
i costi nello sviluppo di nuovi utensili e di ottimizzare le prestazioni
degli utensili stessi [28, 29].
A fronte dei numerosi vantaggi in termini economici e di prestazioni
rispetto ai processi tradizionali (elencati nella Sezione 2.1), lo stam-
paggio a caldo richiede una progettazione estremamente precisa degli
stampi, in quanto il prodotto stampato e` finito sia dal punto di vista
geometrico che microstrutturale.
La simulazione numerica serve per prevedere l’evolvere del processo,
individuare i punti caldi negli stampi, i punti troppo sollecitati, le
regioni di eccessivo assottigliamento del pezzo, e soprattutto per evi-
denziare il ripercuotersi di queste eventuali anomalie sulle proprieta`
meccaniche del pezzo finito.
Per rispondere alle domande del progettista, il codice numerico deve
considerare [3]:
• la dipendenza dei parametri del materiale dalla temperatura e dalla
velocita` di deformazione;
• la dipendenza del coefficiente di scambio termico dalle condizioni
di processo;
• ladipendenzadelle trasformazionidi fasedallo statodi sollecitazione
termico e meccanico.
Per questi motivi la simulazione del processo di stampaggio a caldo
necessita di un’analisi accoppiata termo-meccanica-metallurgica del
problema, che necessita della conoscenza delle leggi fenomenologiche
che descrivono i legami tra questi tre aspetti [5]. La generazione di dati
accurati per la calibrazione di tali modelli e` l’obiettivo principale di
molti studi scientifici condotti in questo ambito.
I dati di input da inserire in unmodello virtuale da risolvere attraverso
l’analisi agli elementi finiti sono di tre tipi [3]:
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• dati geometrici: forma e dimensione di tutti gli oggetti che interven-
gono attivamente nel processo;
• dati materiali: proprieta` termiche e meccaniche che descrivono
in modo esaustivo il comportamento dei materiali all’interno del
campo di sollecitazione di interesse per l’applicazione;
• dati di interazione: leggi che descrivono il modo in cui i diversi
oggetti interagiscono. Possono essere leggi d’attrito, criteri di rot-
tura, leggi di scambio termico, ecc.
Fig. 2.4. Struttura tipica della simulazione agli elementi finiti per lo stampaggio a caldo.
Nelle seguenti sezioni sono descritte tre tecniche diverse utilizzate
per l’identificazione di parametri, con esempi di applicazioni per la
determinazione del HTC. La prima tecnica presentata si basa su delle
misure di campo eseguite durante delle prove di laboratorio di stam-
paggio a caldo attraverso le quali si identifica analiticamente ilHTC. La
seconda e` una tecnica largamente utilizzata, che utilizza delle strate-
gie di ottimizzazione per la risoluzione di problemi agli elementi finiti
posti in modo inverso; la terza tecnica proposta sfrutta il metodo ana-
logico per la modellazione semplificata del problema dello scambio
termico la cui soluzione e` poi trovata per via analitica.
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2.3.1 Identificazione analitica
Per determinare il HTC in prove di laboratorio di stampaggio a caldo
della lamiera e` stata sfruttata, in alcuni lavori che si riferiscono proprio
allo Usibor [30], la soluzione dell’equazione di conduzione del calore
per un corpo a resistenza interna trascurabile 2.2.3. La riconduzione
delle prove a dei modelli matematici semplici presuppone l’adozione
di accorgimenti tecnici e tecnologici specifici, che mirano a rendere la
situazione reale del tutto simile a quella teorica descritta dall’equazione
di cui si cerca la soluzione.
Per identificare il HTC e` stato condotto un test di stampaggio durante
il quale sono state rilevate le temperature del campione e degli stampi.
Tali dati rilevati sono stati sfruttati per trovare il valore di HTC tra
stampi e campione secondo la formula proposta: ( 2.11)
T(t) = Tst. + (Tc.in. − Tst.) e−HTC ACs t (2.11)
Dove:
T(t): evoluzione della temperatura del campione;
Tst.:temperatura iniziale degli stampi;
Tc.in.:la temperatura iniziale del campione;
HTC: coefficiente di scambio termico, di cui si cerca il valore;
A: area apparente della superficie di contatto tra stampo e campione;
Cs: calore specifico del materiale degli stampi.
Con questa tecnica sono state identificati valori diHTC al variare della
pressione di contatto, della temperatura e del tempo di austenitiz-
zazione per campioni in Usibor stampati con acciaio da stampaggio
a caldo. Le pressioni indagate variano dagli 0MPa agli 40MPa, che
delimitano il campo di pressioni solitamente riscontrabile industrial-
mente nei processi di stampaggio a caldo dello Usibor [31].
Tecniche simili a quella descritta sono utilizzate per l’identificazione
delHTC [32,33], specialmete in processi di forgiaturamassiva: in questi
casi sono proposte delle linee guida alla progettazione dei test per la
raccolta dei dati [34] che forniscono importanti indicazioni sulla collo-
cazione dei punti di misura della temperatura su stampo e campione,
sugli strumenti da utilizzare e sulle loro modalita` d’utilizzo.
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formulation to evaluate HTC. In recent years, thanks to the improvements in numerical 
methods and computer techniques, a growing interest in the evaluation of heat transfer 
has emerged, with the aim of providing numerical codes with a proper description of the 
process thermal boundary conditions. Several evaluation techniques can be performed to 
determine the value of h and the main research works related to the hot stamping process 
are reported. 
The matching method consists on fitting the experimental temperature distribution to 
analytical or numerical solutions given by a thermo-mechanical model of the experiment 
for various values of h. The introduction of a model thus requires assumptions concerning 
material behaviour and values of thermal properties of specimens and dies that can lead, 
in case of inaccurate data, to a reduction of the relevance of the computed heat transfer 
coefficients.  
Lechler et al. [1] studied the heat transfer coefficient evolution with contact pressure 
















??         (2.15) 
where T0 and T(t) represent the initial and the actual temperature of the blank measured 
during the experiments and ?T  indicates the temperature of the contact plates, which is 
assumed to be constant. Figure 2.16 shows some results for the USIBOR 1500 P® heat 
transfer coefficient evolution with respect to the applied contact pressure. 
Figure 2.16 Heat transfer coefficient between workpiece and dies as function of the temperature and of the 
applied contact pressure [12] Fig. 2.5. Valori di HTC al variare della pressione di contatto [30].
2.3.2 L’analisi inversa
Al fine di individuare dati certi da inserire come input delle analisi
di modelli agli elementi finiti (problema diretto), viene spesso usata la
tecnica dell’analisi inversa [35]. Questa tecnica prevede la realizzazione
parallela di un test sperimentale e di una simulazione numerica: lemis-
urazioni eseguite sul test sperimentale forniscono i dati di input della
simulazione ed un dato confrontabile col risultato della simulazione
e in grado quindi di stimarne la qualita`. Un parametro della simu-
lazione, l’oggetto dell’analisi inversa, viene fatto variare fintantoche´ il
risultato della simulazione stessa coincide con quello del test reale. In
questo modo viene identificato un parametro necessario alla corretta
impostazione della simulazione e non misurabile in modo diretto.
Fig. 2.6. Confronto tra problema diretto ed inverso.
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L’analisi inversa viene utilizzata per individuare leggi che de-
scrivono il comportamento plastico dei materiali e leggi di flusso: in
questi casi le leggi hanno espressione anche molto complessa e i coef-
ficienti da inserire in essi vengono calcolati attraverso procedure che si
avvalgono di tecniche di ottimizzazione multiobiettivo [35, 36].
Dal punto di vista matematico, un sistema fisico si puo` descrivere
attraverso un modello che esprime la risposta del sistema (Mc) in fun-
zione dei parametri che descrivono il sistema e tenendo conto delle
condizioni al contorno. In formule:
Mc = S(x) (2.12)
dove x rappresenta i parametri che descrivono il sistema e S e` detto
operatore diretto. Il problema inverso, invece, richiede di individuare
i valori dei parametri (x) che permettono al sistema di fornire una
risposta (Mc) equivalente a quella misurata sul sistema fisico (MExp). In
formule:
x = S−1(Mc) (2.13)
Mc =MExp (2.14)
Le condizioni di risoluzione dell’equazione 2.13 sono:
• esiste una soluzione al problema per ogni risposta M possibile;
• la soluzione e` unica nello spazio dei parametri x del modello;
• la risposta M del sistema e` continua nello spazio dei parametri x.
Il problema dell’identificazione di parametri [37, 38] e` un problema
d’analisi inversa che consiste nel trovare i valori dei parametri x che




i + λii = 1 : s (2.15)
Oppure, introducendo un fattoremoltiplicativo β che “pesa”le risposte
del sistema secondo considerazioni fisiche, si definisce la funzione




βi(MEXPi −Mci )2 (2.16)
dove β e` lo scarto tra le corrispondenti risposte del sistema misurate
e calcolate, tenendo conto delle approssimazioni numeriche, delle in-
certezze di misurazione e dello scostamento tra modello matematico e
reale dovuto a semplificazioni e assunzioni.
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2.3.3 Le tecniche di ottimizzazione
Il problema della ricerca del minimo di una funzione e` molto ricorrente
nel campo della fisica e della matematica [39, 40]; laddove il minimo
non e` individuabile per via analitica si ricorre alle tecniche di mini-
mizzazione numerica. Detto P un problema ed α una sua soluzione (o
un suo minimo) il metodo numerico di ottimizzazione consiste in un
procedimento iterativo che genera una successione xk convergente ad
α.
I problemi di minimizzazione piu` semplici sono quelli in una vari-
abile, detti monodimensionali: le piu` note tecniche di risoluzione di
questi problemi sono imetodi diretti (senza calcolo della derivata) della
bisezione sequenziale, di Fibonacci e della sezione aurea, ed i metodi
di interpolazione polinomiale. L’ottimizzazione puo` essere vincolata
o meno, a seconda che si possa fissare un dominio di ricerca non in-
finito entro cui si trova il minimo della funzione: generalmente i vincoli
semplificano di molto la ricerca del minimo e la rendono decisamente
efficiente.
Per l’ottimizzazione relativa alla risoluzione di problemi di analisi in-
versa, si fa spesso ricorso ad algoritmi misti, che limitano il numero di
iterazioni e consentono di eseguire un numero ridotto di simulazioni.
Infatti, nell’impossibilita` di disporre di una espressione analitica che
esprime l’andamento della funzione da minimizzare rispetto alla vari-
abile oggetto dell’identificazione, e` necessario compiere per ciascun
valore tentativo della variabile una simulazione numerica che fornisca
il valore della funzione obiettivo.
Per l’identificazione presentata (Sezione 4) si e` utilizzato un algoritmo
misto basato sul metodo della regula falsi: si scelgono due valori di
innesco (x0 ed x1) e vengono calcolati i valori della funzione (Q(x1) e
Q(x2)). Il terzo valore della serie xk convergente ad α (che nei problemi
di minimizzazione corrisponde al valore di x per cui la funzione Q(x)
assume il suo minimo) e` individuato dall’intersezione dell’asse delle
ascisse con la retta passante per i punti (x0,Q(x0)) e (x1,Q(x1)).
Per problemi di minimizzazione, e` possibile, col procedere delle iter-
azioni e il disporre via via di un numero maggiore di punti (xi,Q(xi)),
individuare il termine (k+1)-esimo della serie come il vertice della
parabola passante per i punti (xk−2,Q(xk−2)),(xk−1,Q(xk−1)) e (xk,Q(xk)).
La convergenza, a seconda della forma della funzione Q, puo` essere
migliore localmente utilizzando il procedimento iterativo di un tipo
piuttosto che dell’ altro.
26 2 Stato dell’arte
2.3.4 Il metodo analogico
Il metodo analogico permette di utilizzare conoscenze che vengono
dallo studio dei circuiti elettrici per risolvere problemi di trasmissione
del calore [41]. Prima dell’avvento dei computer digitali (negli anni
50 e 60 del secolo scorso soprattutto) molti problemi termici veni-
vano affrontati in questo modo: cosı` le leggi di Fourier e della conti-
nuita` che descrivono un problema termico in regime non stazionario
trovano soluzione attraverso la risoluzione delle equazioni di Ohm
e di Coulomb che descrivono il transitorio del circuito elettrico anal-
ogo. L’analogia tra leggi che descrivono un circuito elettrico e leggi
che descrivono il trasporto di calore implica di stabilire delle analo-
gie tra grandezze elettriche e grandezze termiche, come riportato in
tabella 2.3.4.
Gr. termica Gr. elettrica
temperatura differenza di potenziale
flusso termico corrente elettrica
resistenza termica resistenza elettrica
capacita` termica capacita` elettrica
Table 2.2. Analogia tra grandezze termiche ed elettriche.
Modellando il problema termico dello scambio di calore tra due
corpi, la differenza di temperatura tra i due corpi puo` quindi essere
considerata come la differenza di potenziale imposta da un generatore,
la capacita` termica dei due corpi come la presenza di due condensatori,
la loro resistenza interna come una resistenza elettrica e la resistenza
termica superficiale (l’inverso del coefficiente di scambio termico glob-
ale) come una resistenza aggiuntiva da inserire in serie nel circuito.
Considerando un problema di conduzione termica monodimension-
ale senza generazione interna di calore, il campo termico sul dominio
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dove a e` la diffusivita` termica.
Consideriamo poi il problema elettrico di un filo conduttore con re-
sistenza specifica per unita` di lunghezza r′ e capacita` specifica per
unita` di lunghezza c′, privo di autoinduzione e di conduttanza di dis-
persione. Per un tratto infinitesimo del filo si puo` scrivere, combinando










Si nota immediatamente che la 2.17 e la 2.18 sono formalmente uguali,
e quindi la soluzione del problema termico potra` essere trovata come
soluzione del circuito elettrico cui la 2.18 si riferisce.
La forza del metodo analogico risiede nell’impossibilita` di realizzare
una distribuzione uniforme e continua della capacita` elettrica: esse
deve essere rappresentata da un numero finito di condensatori local-
izzati, sostituendo di fatto il modello elettrico descritto dalla 2.18 (e
quello termico descritto dalla 2.17) con un modello a parametri con-
centrati di piu` facile (anche se approssimata) risoluzione. Di fatto, il
metodo analogico equivale all’applicazione al problema termico del
metodo delle differenze finite, largamente utilizzato nei codici FE.

3Prove sperimentali
L’obiettivo dei test e dell’analisi dei risultati e` quello di identificare
i valori di HTC al variare della pressione di contatto per diversi ac-
coppiamenti di materiali. La scelta dei materiali tiene conto dello stato
dell’arte del processo industriale e delle innovazioni che si possono ap-
portare alla luce dello sviluppodimateriali ceramici innovativi [42–45].
Il processo standard considerato e` quello per la lavorazione dello Usi-
bor 1500P R© in forma di lamiera da 1.5mm di spessore.
Nel test sono replicate le condizioni di processo, in quanto il HTC e`
significativamente influenzato da esse [46], cercando inoltre di facil-
itare la raccolta dei dati di input per l’analisi inversa e di garantire la
massima ripetibilita` dei test stessi.
Nelle sezioni che seguono e` riportata la descrizione della procedura
di test, della campagna sperimentale, delle misure effettuate, del cam-
pione utilizzato per la prova, degli utensili da stampaggio utilizzati e
dell’interpretazione dei dati rilevati.
Fig. 3.1. Logica di progettazione del test.
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3.1 La prova
Il test [47,48] ha comeobiettivo la rilevazionedidati per l’identificazione
del HTC: viene condotto attraverso lo stampaggio piano in assenza di
deformazione plastica di un campione precedentamente austenitizzato
in forno [17]. Durante il test viene monitorato il campo termico interno
agli stampi attraverso 5 termocoppie [49] in esso alloggiate ed il campo
termico del campione a inizio stampaggio grazie ad una termocamera
a raggi infrarossi (descritta nella Sezione 3.1.3).
Il test deve garantire un elevato grado di ripetibilita` ed essere con-
dotto in condizioni simili a quelle industriali, in quanto il HTC e` un
parametrodi processo che risentemolto delle condizioni di conduzione
della prova.
I test sono stati condotti sulla base di un piano di esplorazione diretta
delle pressioni di contatto, con ripetizione del test per una sua piu`
corretta interpretazione e per l’analisi di eventuali anomalie nella con-
duzione o nella misura.
Completato il piano sperimentale di test di identificazione, sono state
condotte delle analisi del materiale stampato per avere un ulteriore
validazione sull’identificazione eseguita.
Nei prossimi paragrafi verra` descritta la procedura di conduzione del
test, le misure effettuate ed il piano sperimentale adottato.
3.1.1 La conduzione della prova
Il test prevede il riscaldamento del campione alla temperatura di 950 ◦C
all’interno di un forno: il riscaldamento avviene con velocita` inferiore
ai 12 ◦C/s per evitare il danneggiamento del rivestimento e il tempo di
permanenza in forno e` di 6min, sufficiente all’omogeneizzazione com-
pleta della temperatura senza indurre un indesiderato accrescimento
del grano cristallino.
Il campione viene estratto dal forno mediante un dispositivo ap-
posito, attraverso il quale si posiziona poi il campione tra gli stampi,
equidistante 1mmdagli stessi (figura 3.4): il pianodi simmetria trasver-
sale del campione coincide con il piano di misura definito dalle giun-
zioni calde delle termocoppie (figura 3.6). L’operazione di trasferi-
mento deve essere molto rapida, per evitare un eccessivo decadimento
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Fig. 3.2. Procedura di conduzione del test e rilievo delle grandezze per l’identificazione.
di temperatura [50]. La distanza del campione dagli stampi e` la min-
ima possibile, per ridurre il tempo tra la rilevazione del campo termico
del campione e la chiusura degli stampi e per fare si che lo scambio
termico tra stampi e campione sia dovuto in gran parte alla convezione
rispetto all’irraggiamento [23].
L’approccio degli stampi al campione e` considerato simmetrico, visto
che la velocita` di applicazione del carico (la pressa utilizzata consente
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una velocita` di spostamento di 20mm/s) consente di avere un tempo
di ritardo tra il contatto del campione con lo stampo superiore e quello
con lo stampo inferiore di 0.05 s .
Il dispositivo di stampaggio utilizzato (figura 3.3) su cui sono mon-
tati gli stampi assicura il perfetto parallelismo tra le superfici degli
stampi ed il campione, distribuendo in modo omogeneo la pressione
sull’intera area di contatto.
Il test si conclude dopo 40 s dall’istante di chiusura degli stampi.
3.1.2 Apparecchiatura di prova e sistemi di acquisizione
Per il riscaldamento del campione e` stato utilizzato un forno a muf-
fola Nabertherm HTC 08/15 con resistenze riscaldanti in SiC, della
Fig. 3.3. Setup di prova con dispositivo di afferraggio e posizionamento del campione.
Fig. 3.4. Dettaglio della sospensione del campione tra gli stampi prima della loro chiusura.
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potenza di 13 kW, temperatura massima raggiungibile di 1500 ◦C. La
camera interna del volumedi 8 litri consente una agevole estrazione del
campione, con perdite di temperatura contenute all’apertura. Il forno
e` collocato in posizione prossima alla pressa, con apertura rivolta in
direzione opposta per evitare che all’apertura venga alterata la tem-
peratura ambientale in prossimita` degli stampi.
La pressa utilizzata per i test e` una Instron 8516 da 100 kN, sulla quale
e` statomontato il sistema di stampaggio riportato in figura 3.3. Il carico
viene trasferito agli stampi mediante il sistema riportato in figura 3.5 .
Questo accorgimento tecnico permette di garantire:
• la ripetibilita` di posizionamento iniziale degli stampi;
• il parallelismo delle superfici degli stampi a contatto col campione;
• il posizionamento del campione preciso e ripetibile.
Fig. 3.5. Disegno del dispositivo di sospensione e movimentazione degli stampi.
Il dispositivodi sospensione emovimentazionedegli stampimantiene
la distanza tra gli stampi al valore di 3.5mmattraverso 4mollemontate
sulle guide di scorrimento. La discesa dello stampo superiore lungo le
guide e` indotta dal carico applicato dalla pressa senza connessione
rigida: in questo modo la piastra di fissaggio dello stampo superiore
rimane basculante, garantendo il parallelismo tra gli stampi e rispetto
al campione. Sulla piastra inferiore del dispositivo sono montate le
squadrette di posizionamento dello stampo e lo scivolo per il disposi-
tivo di trasferimento del campione.
L’acquisizione delle termocoppie e della cella di carico montata sulla
pressa viene effettuata attraverso un sistema di acquisizione Agilent
34980A su cui e` montato un modulo multiplexer a bassa frequenza
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34921A che permette una risoluzione di rilevazione su 6 canali alla
frequenza di 100Hz di 0.1 ◦C. I dati rilevati vengono salvati su file at-
traverso un programma dedicato sviluppato in ambiente NI LabVIEW
appositamente per questa applicazione.
L’immagine termografica rilevata dalla termocamera e` elaborata da un
software dedicato che permette di effettuare filmati che possono essere
salvati e processati in seguito. Il software consente la sincronizzazione
della termocamera con il dispositivo di acquisizione delle termocoppie
e della cella di carico, in modo da disporre di tutti i dati rilevati su una
stessa scala temporale riferita.
3.1.3 Le misure
Per la misura del campo termico interno allo stampo sono state utiliz-
zate termocoppie di tipo K, Chromel (Ni-Cr, +) , Alumel (Ni-Al, -), con
intervallo di misura da -200 ◦C a 1260 ◦C, con sensibilita` di 41 µV/circC.
La giunzione calda e` di dimensioni ridotte (1.2mm il diametro medio)
per aumentare la prontezza di risposta nella misura. Il posizionamento
della giunzione calda e` stato eseguito senza incollaggi, per evitare in-
terferenze nella misura, ed e` mantenuto nel corso dei test da 3 punti
di fissaggio con loctite della guaina alla cava posti prossimamente al
punto di misura ad una distanza dalla superficie non inferiore ai 4mm.
Fig. 3.6. Dettaglio della posizione relativa tra campione, stampi e termocoppie.
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La misura del campo termico del campione nell’istante di chiusura
degli stampi e` stata eseguita in modo indiretto rilevando con una ter-
mocamera a raggi infrarossi la temperatura del campione nell’istante
di ingresso tra gli stampi. Considerando questo istante come iniziale
per lo scambio di calore tra campione e stampi e misurando il tempo
trascorso fino alla chiusura degli stampi, e` stata eseguita una simu-
lazione agli elementi finiti che stima l’evoluzione del campo termico
del campione sulla base del suo ripercuotersi sul campo termico dello
stampo.
L’immagine termografica (Figura 3.7) e` ottenuta grazie ad una termo-
camera FlirA325, con frequenzadi aquisizione di 50Hz chepermette di
cogliere il campione inmovimento. La stimadell’emissivita` dell’acciaio
e` stata eseguita su un campione riscaldato in forno a 1200 ◦C e lasci-
ato raffreddare misurando la sua temperatura con una termocoppia a
contatto di tipo K. L’emessivita` media calcolata nell’intervallo di tem-
peratura compreso tra 700 ◦C e 900 ◦C e` di 0.92.
La misura del carico applicato agli stampi e quindi della pressione di
contatto sul campione e` eseguita mediante la cella di carico montata a
bordo della pressa ed acquisita in modo sincronizzato con termocop-
pie e termocamera: cio` permette di riferire gli istanti di di ingresso del
lamierino, di chiusura degli stampi e l’evoluzione del campo termico
ad una stessa scala temporale.
Fig. 3.7. Rilevazione della tempratura di ingresso del campione mediante termocamera.
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3.1.4 Il piano sperimentale
Il piano di prove prevede l’esecuzione di test a 5 livelli di pressione,
come riportato in tabella 3.1.4. Per ciascun livello di pressione si sono
ripetuti 5 test a variazione libera controllata della temperatura iniziale
del campione [51].
Il piano sperimentale e` stato eseguito bloccando l’accoppiamento di
materiali e eseguendo le prove all’interno del blocco in ordine casuale.
Pressione MPa 5 10 20 30 40
Forza applicata kN 8.975 17.950 35.900 53.850 71.800
Table 3.1. Valori di pressione e carico applicato nei test.
Il test, della durata di 40 s, e` succeduto da un tempo di riposo di
circa 40min che permette il ritorno degli stampi a temperatura ambi-
ente: questo accorgimento minimizza l’effetto dello scambio termico
tra stampo e ambiente sul raffreddamento del campione.
Il disporre di 5 ripetizioni di ciascun test permette in primo luogo di
selezionare le prove migliori ed inoltre di effettuare delle importanti
considerazioni sugli errori sistematici e casuali, come presentato in
modo esteso nella Sezione 3.4.
3.2 Il campione
L’industria automobilistica mondiale adotta come materiale standard
per la produzione di componenti attraverso stampaggio a caldo una
lamiera rivestita, che ha come materiale base il 22MnB5 (presentato in
2.1.4) e come rivestimento una combinazione di ossidi di alluminio e
silicio: questomateriale e` brevettato daArcelorMittalTM col nomediUsi-
bor. Il rivestimento, di spessore compreso tra i 23µm ed i 32µm serve a
preservare il materiale dall’ossidazione a caldo durante l’operazione di
trasferimento, cosı` da permettere la produzione di pezzi dalla buona
finitura superficiale, che non richiedono successivi trattamenti (sab-
biatura o altri).
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Proprieta` Unita` di misura Valore Intervallo (◦C)
E GPa 210 [20,1200]
Cs J/kg/K
425 + 7.73 × 10−1T − 1.69 × 10−3T2+ [20,600]
+2.22 × 10−6T3
666 + 13002/(738 − T) (600,735]
545 + 17820/(T − 731) (735,900]
650 (900,1200]




−2.416 × 10−4 + 1.2 × 10−5T + 0.4 × 10−8T2 [20,750]
1.1 × 10−2 (750,860]
−6.2 × 10−3 + 2 × 10−5T (860,1200]
ρ kg/m3 7860 [20,1200]
Table 3.2. Proprieta` dello Usibor 1500P R©
Fig. 3.8. Disegno del campione di prova utilizzato.
Le dimensioni del campione (Figura 3.8) permettono l’applicazione
di una pressione massima di circa 55 MPa al valore di forza applicata
di 100 KN (massima consentita dalla pressa utilizzata). La superficie
del campione e` di 1875mm2 e la sua impronta sugli stampi nel corso
della prova di 1795mm2.
Il numero di Biot associato al campione durante il suo trasferimento
dal forno alla pressa e` calcolato sulla base dei dati ricavati da Figura
3.9 risolvendo il sistema:
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Q1 −Q2 = ρ C V (T1 − T2) (3.2)
Q1 −Q2 = α A (T1 − T2) (3.3)
da cui:
α = 300 W/m2/K;
Bi = 0.01
Il calcolo del numero di Biot e` effettuato considerando le proprieta` del
materiale nell’intervallo di decadimento di temperatura rilevato dalla
termocamera (vedere Tabella 3.2).
Per corpi aventi numero di Biot inferiori a 0.1 la temperatura su tutto il
dominio puo` essere considerata uniforme entro il 5%: cio` sara` sfruttato
per giustificare delle assunzioni fatte nell’identificazione.
Unita` di misura Valore Intervallo (◦C)
Peso Kg 0.021 [20-1200]
Bi – 0.01 [700-750]
Ra µm 1.76 [20,1200]
Rz µm 13.1 [20,1200]
Table 3.3. Proprieta` del campione.
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sheet has to be heated up to the austenitization temperature not faster than 12K/s in order 
to allow this alloying reaction and preserve the layer integrity [4].  
Other advantages of the USIBOR 1500 P® are the good spot weldability using 
conventional equipment, the increased paintability and corrosion resistance and the 
enhanced fatigue strength and impact resistance that can lead to a significant lightening 
potential in structural and safety components, such as B-pillars, fender beams, door 
reinforcements, middle posts etc. Furthermore, expensive protective post-coating like zinc 
painting are not necessary and the suppression of the furnace inert atmosphere and of the 
surface finishing operations leads to considerable time and money saving. 
The proper design and optimization of the hot stamping involves a large number of 
parameters, regarding both the material and the process, that are strictly interrelated and 
that strongly affect the final component characteristics. In order to obtain the desired 
properties and quality on final parts, particular attention has to be paid to the factors that 
mostly influence the cycle time, the process parameters and their stability, in particular: 
- the austenitization in the furnace should be performed with respect to the 
metallurgical transformation, in order to obtain a homogeneous austenitic 
microstructure, and to the intermetallic alloying reaction between the iron substrate 
and the Al-Si coating; 
- the transfer time should be reduced as much as possible in order to limit the heat 
loss because at lower forming temperature the material formability is reduced and 
undesirable local phase transformations could occur; 
- the forming phase should be fast enough to reduce the heat exchange between 
blank and dies during deformation, thus considering the influence of strain rate and 
temperature on the material rheological behaviour; 
Figure 2.4 Micrograph of USIBOR 1500 P® Al-Si coating [10] 
Fig. 3.10.Micrografia della lamiera in Usibor 1500P R© con in evidenza il rivestimento superfi-
ciale.
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L’impiego di materiali ceramici ad elevate prestazioni meccaniche per
l produzione di stampi puo` differenziare il trattamento t rmico in
stampo e migliorarne il controllo, permettendo, potenzialmente, la
produzione di componenti amicrostruttura nonmartensitica (ferritico-
perlitica oppure parzialmente bainitica) oppure con gradienti mi-
crostrutturali. C mponenti di questo tipo sono richi sti in tutti i casi in
cui l’assemblaggi del componente nell’assieme richiede la saldat ra
o la bullonatura, in quanto le zone di connessione in questi casi non
possono avere microstruttura martensitica.
Per questi motivi si e` deciso di testare come materiali da stampi dei
c ramici, che coniugano propriet` meccanic e molto elevate a pr -
prieta` termiche che prospettano un raffreddamento del pezzo a con-
tatto con lo stampo molto lento rispetto a cio` che avviene con l’utilizzo
dell’acciaio.
Nelle prossime sezioni sono descritte la geometria degli stampi e le
caratteristich piu` importanti di allumi a, mac r e zirconia parzial-
mente stabilizzata (zirconia p.s.), che sono i tre materiali ceramici scelti
per i test.
3.3.1 Geometria degli stampi
Sono stati utilizzati stampi piani, a forma di parallelepipedo di lati
100mm per 100mm p r 50mm. Cia cu o stampo (superiore ed infe i-
ore, secondo la loro collocazione rispetto al campione, comemostrato in
Figura 3.4) si compone di due meta` che vengono assemblate mediante
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barre filettate passanti. Ciascuna meta`, come da Figura 3.6, presenta
5 cave semicilindriche praticate sul piano di accoppiamento che con-
sentono la collocazione di 5 termocoppie con punto dimisura prossimo
al pianodi contatto col campione. La composizione dello stampo indue
meta` aumenta la precisione di collocazione delle giunzioni delle termo-
coppie e ne permette la verifica dell’esatta posizione dopo l’esecuzione
dei test.
Le dimensioni degli stampi conferiscono agli stessi una capacita`
termica totale molto elevata rispetto al campione e rendono il raffred-
damento dello stesso poco sensibile alle condizioni di convezione sui
bordi dello stampo.
Le cave di adduzione delle termocoppie, del diametro di 2mm (comp-
lessivo, a stampo assemblato), alloggiano le termocoppie creando una
leggera interferenza che limita la presenza all’interno dello stampo di
sacche d’aria che potrebbero influenzare la distribuzione del flusso ter-
mico. Le 5 termocoppie sono poste a differenti distanze dal piano di
contatto col campione: 0.5mm la termocoppia centrale (A), 1mm le ter-
mocoppie laterali interne (C) poste simmetricamente a 5mm dalla ter-
mocoppia centrale, e 1.5mm le termocoppie laterali esterne (B), poste
simmetricamente a 10mm. Il piano individuato dai 5 punti di misura
corrisponde al piano di simmetria per stampi e campione (Figura 3.15)
ed in seguito verra` menzionato come piano di misura.
Fig. 3.11. Dettaglio dei punti di misura.
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3.3.2 L’acciaio per stampi
Il processo di riferimento considerato prevede l’utilizzo di un acciaio
Bohler W300 [52], di composizione chimica media riportata in Tabella
3.3.2. Si designano come acciai per lavorazioni a caldo gli acciai da
utensili destinati alla deformazione a caldo di metalli e le loro leghe
mediante procedimenti di stampaggio, estrusione, pressofusione. Ven-
gono sottoposti in servizio, a sollecitazioni meccaniche cicliche a tem-
perature superiori ai 250 ◦C.
C Cr Mo V Si
0.38 5.00 1.30 0.40 1.10




450 + 0.28T − 2.91 × 10−4T2+
1.34 × 10−7T3
K W/m/K 27 + 6 × 10−3T
α 1/K 13.3 × 10−6
ρ kg/m3 7750




Table 3.5. Proprieta` termiche e meccaniche dello stampo in acciaio [52].
3.3.3 Materiali ceramici
I materiali ceramici scelti per essere qualificati sono l’allumina (pura al
99.5 %), il macor e la zirconia parzialmente stabilizzata [53].
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L’allumina e` un materiale largamente conosciuto, abbastanza tenace e
dalle buone caratteristiche meccaniche. Le sue proprieta` termiche non
sono estreme per essere un ceramico, tanto da essere confrontabili con











Table 3.6. Proprieta` termiche e meccaniche dello stampo in allumina [54].
Il Macor e` un materiale utilizzato per la produzione di componenti
meccanici che devono sopportare sollecitazioni anche gravose. E’ un
materiale lavorabile alle macchine utensili, stabile fino a temperature
superiori ai 1000 ◦C edutilizzatoper applicazionimediche, aerospaziali
e nucleari in cui l’isolazione termica da parte del componente e` richi-
esta.
SiO2 MgO Al2O3 K2O B2O3 F
46 17 16 10 7 4
Table 3.7. Composizione chimica del macor [55].
La zirconia parzialmente stabilizzata (zirconia p.s.) e` un materiale
dalle elevate proprieta` meccaniche, ottenute attraverso stabilizzazione
parziale mediante aggiunta di ossido di ittrio (Y2O3) [56].











Table 3.8. Proprieta` termiche e meccaniche del macor.
L’ossido di zirconio (ZrO2) e` un materiale che ha pressione ambiente
presenta tre fasi stabili:
• monoclina (baddelite): stabile fino a 1170 ◦C;
• tetragonale : stabile fino a 2370 ◦C;
• cubica: stabile fino alla temperatura di fusione (2680 ◦C);
La trasformazione tetragonale-monoclina e` di tipomartensitico, con
aumento di volume del 3-5 %. L’aggiunta di ossido di Ittrio rende sta-
bile la fase tetragonale a temperatura ambiente, come mostrato dal
diagramma di fase (Figura 3.12). La trasformazione di fase da tetrag-
onale a monoclina si verifica a temperature inferiori a 550 ◦C all’apice
delle cricche in fase di propagazione grazie agli sforzi di trazione pre-
senti. L’aumento di volume conseguente alla trasformazione genera
di contro uno sforzo di compressione che ostacola il propagarsi della
cricca e migliora sensibilmente le proprieta` meccaniche del materiale.
La scelta della zirconia p.s. rispetto a quella completamente stabiliz-
zata, che ha proprieta` termiche piu` estreme, deriva dal fatto che la
stabilizzazione parziale offre migliori proprieta` di resistenza mecca-
nica.
3.4 I dati rilevati
I dati rilevati durante i test sono:
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0,75!m. Inevitabilmente saranno presenti particelle più grandi che daranno vita a 
microcriccature. 
!"#" $%&'()%*+,*&$%*-./)0/+10*2%-%$$*0*+
L’ossido di yttria è un composto che stabilizza la struttura cubica della zirconia a 
temperatura ambiente, come si può vedere dal diagramma di fase: 
 
345678+9:+;48578<<8+;4+=>8>?+;@A+=4=>@<8+$7(BCDB(E"+
Fig. 3.12. Diagramma di stato del sistema ZrO2 Y2O3.
ZrO2 Y2O3 Al2O3
95.5 4.0 0.5
Table 3.9. Composizione chimica della zirconia p.s. [57].
• istante di ingresso del campione tra gli stampi (t0);
• temperatura di ingresso del campione all’istante t0;
• istante di chiusura stampi;
• evoluzione di temperatura all’interno degli stampi in 5 punti di
rilevazione;
• microdurezzadel campione stampato sulla sezionemediana trasver-
sale (Figura 3.15).
I test sono ripetuti 4 volte per ciascun livello di pressione, e le mis-
urazioni di temperatura all’interno dello stampo sono ridondanti: cio`











Table 3.10. Proprieta` termiche e meccaniche della zirconia p.s. [57].
permette un’analisi della qualita` dei dati rilevati, con individuazione
di eventuali anomalie nel posizionamento delle termocoppie e nella
conduzione della prova. I dati rilevati nel corso del test, riportati
in Figura 3.13 vengono selezionati e trattati per essere utilizzati per
l’identificazione secondo i criteri esposti nella prossima Sezione.
3.4.1 L’interpretazione dei dati rilevati
I dati rilevati nel corso del test possono essere affetti da errori derivanti
da:
• imprecisioni di lavorazione dei fondi cava nello stampo;
• imprecisioni di collocazione delle giunzioni calde delle termocop-
pie;
• problemi di movimentazione del campione;
• problemi di posizionamento del campione;
Le prime due cause originano un errore sistematico che aﬄigge tutti
i test di uno stesso blocco (condotti su uno stesso accoppiamento di
materiali), mentre le altre due cause originano un errore casuale. Un
esempio di errore sistematico si puo` apprezzare in Figura 3.14: in tutte
le ripetute, la temperatura rilevata dalla termocoppia laterale destra
e` superiore rispetto a quella rilevata dalla termocoppia laterale sin-
istra. La differenza tra i profili di temperatura e` pressoche´ costante
nelle 4 ripetute: tale differenza e` dovuta in parte all’imprecisione della
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Fig. 3.13. Rilevazione dei tempi di simulazione.
lavorazione del fondo della cava di alloggiamento della termocop-
pia laterale sinistra (all’apertura degli stampi, il fondo cava risulta
ad una quota di 1.2mm rispetto al piano di stampaggio, contro la
quota nominale di 1mm) ed in parte all’imprecisione di collocazione
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Fig. 3.14.Dati acquisiti nella 4 ripetizioni delle prove con stampo in zirconia p.s. alla pressione
di contatto di 30MPa.
della giunzione calda, che puo` non essere perfettamente in contatto
col fondo cava. Per questi motivi, la termocoppia laterale scelta per la
validazione e` sempre quella indica la temperaturamassima piu` elevata
nell’arco della prova.
L’errore casuale e` invece dovuto alla conduzione del test: la sua entita`
e` minimizzata grazie all’adozione degli accorgimenti presentati nella
Sezione 3.1, ed infatti si puo` apprezzare in Figura 3.14 come lo scosta-
mento tra curve di temperatura omologhe (ossia rilevate in punti nom-
inalmente isotermi) sia sostanzialmente lo stesso per ciascuna ripetuta.
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3.4.2 Le misure di microdurezza
Le prove di microdurezza permettono la comprensione dei fenomeni
microstrutturali che avvengono in fase di raffreddamento secondo
quanto riportato in Figura 3.16(b). Le prove consistono nella misura
tramite microindentazione a 0.5N (prova HV 0.05) della durezza del
campione in 7 punti sulla sezione in corrispondenza (nominale) al pi-
ano di misura.
Le prove effettuate a campione evidenziano una sostanziale uniformita`
rispetto alla pressione applicata agli stampi e rispetto alla posizione di
rilievo, essendo la deviazione standard abbastanza contenuta e con-
frontabile con quella del materiale di partenza. In base ai valori di
microdurezza riportati in tabella 3.4.2, e` possibile affermare che a fine
test, per ogni materiale dello stampo considerato, la microstruttura del
campione e` completamente martensitica.
Fig. 3.15. Sezione di misura della microdurezza.
3.4.3 Riassunto dei dati rilevati
I dati rilevati che si presentano sono riferiti a 3 termocoppie anziche´
5: cio` e` dovuto alla scelta di utilizzare i soli dati rilevati dalla termo-
coppia tra le due omologhe che indica la temperatura maggiore (come
illustrato nella Sezione 3.4).
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(a) Curve CCT per lo Usibor 1500P R©,
fornite da ArcelorMittal [50].
(b) Microdurezza misurata a
temepratura ambiente dopo raf-
freddamento a diverse velocita`.
Fig. 3.16. Informazioni per l’interpretazione dei risultati delle misure dimicrodurezza eseguite
sul campione stampato [58].
Materiale stampo acciaio allumina macor zirconia p.s.
materiale t.q.
Durezza HV 0.05 182 565 560 518 520
Deviazione standard HV 0.05 7.8 12.4 21.8 12.4 14.1
Table 3.11. Valori di microdurezza misurati dopo stampaggio.
Dalle curve di temperatura e carico riportate in Figura 3.17 vengono
estratti tutti i dati di input per la successiva identificazione attraverso
l’analisi inversa agli elementi finiti (Sezione 4) e attraverso l’ analogia
elettrica (Sezione 5).
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(a) Stampo in acciaio






















(b) Stampo in allumina






















(c) Stampo in macor






















(d) Stampo in zirconia p.s.
Fig. 3.17. Temperatura rilevata nello stampo per prove eseguite alla pressione di 20MPa e
temperatura iniziale del campione compresa tra 740-760 ◦C.
4Identificazione tramite analisi inversa agli
elementi finiti
L’analisi inversa agli elementi finiti condotta si basa sull’ottimizzazione
delHTC rispetto al campo termico rilevato all’interno degli stampi alla
termocoppia centrale (A, figura 3.11). L’ottimizzazione e` eseguita su un
modello semplificato che replica il test reale: per aumentare la rapidita`
di calcolo del HTC, per l’identificazione e` stato utilizzato un modello
bidimensionale. La riduzione del modello e` giustificata dal confronto
tra le simulazioni ed e` resa possibile dagli accorgimenti adottati nella
progettazione del test.
La simulazione e` stata condotta con il software COMSOL MULTI-
PHYSICS versione 3.4, sfruttando per la gestione della procedura di
ottimizzazione il pacchetto Script.
La simulazionedel test e` puramente termica: la configurazionedi prova
permette di ritenere gli aspetti meccanici ininfluenti ai fini del calcolo
del HTC. La dipendenza del HTC dalla pressione non interviene nel
singolo test ma viene individuata dalla raccolta dei risultati di ciascun
test collezionati secondo il valore della pressione di contatto imposta.
Gli aspetti microstrutturali sono considerati come indipendenti dalla
cinetica di raffreddamento del campione: questa assunzione piuttosto
forte non condiziona di fatto la validita` dell’identificazione.
4.1 Il modello numerico
Nei paragrafi che seguono si trovera` la descrizione dei modelli agli
elementi finiti approntati: il primo, il modello esteso, descrive dettagli-
atamente il sistema ed e` stato largamente utilizzato in fase di proget-
tazione; il secondo, che presenta gia` delle semplificazioni, e` unmodello
52 4 Identificazione tramite analisi inversa agli elementi finiti
di complessita` intermedia che serve a validare numericamente il mod-
ello bidimensionale utilizzato.
Oltre alle semplificazioni geometriche di cui sopra, sono state fatte
delle assunzioni riguardo il comportamento dei corpi durante il test
che non compromettono il risultato dell’identificazione. Il rapporto tra
le capacita` termiche dei corpi considerati, la scelta del piano di misura,
l’alloggiamento delle termocoppie, la tecnica di conduzione e gli ac-
corgimenti tecnici di approccio del pezzo in stampo presentati nella
Sezione 3 trovano giustificazione progettuale nei vantaggi numerici
che comportano e che appariranno chiari nelle sezioni che seguono.
La simulazione effettuata si divide in due parti: la prima ha come obi-
ettivo la stima della temperatura del campione nell’istante di chiusura
degli stampi; la seconda e` l’oggetto dell’analisi inversa ed ha come
obiettivo l’ottimizzazione del HTC rispetto all’evoluzione della tem-
peratura alla termocoppia centrale.
4.1.1 Gli aspetti meccanici e microstrutturali
La progettazione del test permette di trascurare nella simulazione gli
aspetti meccanici e microstrutturali. Per i primi, lo stampaggio piano
del campione rendeomogenea la pressione sull’intera superficie di con-
tatto, ed essendo la pressione applicata costante durante il test non e`
necessario inserire nella simulazione nessuna legge di variazione delle
condizioni di scambio termico rispetto alla pressione. Le pressioni di
contatto sono tali da mantenere le sollecitazioni sui corpi entro il loro
limite elastico.
Le misure di microdurezza eseguite sul campione in corrispondenza
della sezione di misura (Sezione 3.4.2) evidenziano che il materiale
stampato e` completamente martensitico: l’evoluzionemicrostrutturale
del campione puo` quindi essere considerata, con buona approssi-
mazione, costante per tutti i test eseguiti, e l’effetto dell’evoluzione
microstrutturale appunto su quella termica e` computata direttamente
come una quantita` di calore (85 J/kg) [5, 59] generata dal campione
quando questo, in fase di raffreddamento, attraversa la zona della
trasformazione martensitica (inizio trasformazione, Ms = 420 ◦C; fine
trasformazione).
Non considerare l’effetto termico degli aspetti microstrutturali come
dipendente dalla cinetica di raffreddamento del campione puo` causare
delle imprecisioni nella simulazione della temperatura interna agli
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stampi, ma non incide in modo significativo sul valore di HTC identi-
ficato.
Le scelta di identificare per ciascuna prova un unico valore di HTC,
indipendente dalla differenza istantanea di temperatura tra i corpi
a contatto e dalla cinetica di raffreddamento del campione, rende
l’identificazione molto robusta e conferisce ai risultati una validita`
ampia.
4.1.2 La simulazione dell’approccio
La prima parte della simulazione ha inizio nell’istante di rilevazione
della temperatura del campione (acquisita tramite termocamera, figura
3.13) e si conclude nell’istante di chiusura degli stampi, rilevato dal seg-
nale della cella di carico (figura 3.13). L’obiettivo della simulazione e`
stimare il campo termico di campione e stampi nell’istante di chiusura
degli stessi. I dati di input sono la temperatura degli stampi, la tem-
peratura del campione nell’istante di ingresso tra gli stampi e la durata
(individuata dalla distanza tra linea blu e linea rossa, figura 3.13).
La procedura di test minimizza la durata di questa parte di simu-
lazione, affinche´ essa non condizioni in modo significativo l’efficienza
e la qualita` dell’identificazione successiva.
Le assunzioni fatte per questa parte della simulazione sono:
• il campione scambia calore solo con gli stampi;
• il coefficiente di scambio termico globale tra campione e stampi
cresce linearmente nel tempo (seguendo l’andamento del fattore di
vista).
La validita` di queste assunzioni e` strettamente legata alla con-
duzione del test, all’approccio del campione tra gli stampi e degli
stampi sul campione. La durata ridotta del fenomeno considerato (mi-
nore di 1.5 s) rende l’influenza della temperatura di stampi e campione
nell’istante di chiusura sull’identificazione del HTC inferiore al 10%.
Il coefficiente di scambio termico superficiale globale tra stampo e cam-
pione assume valore nullo nell’istante iniziale (linea blu, figura 3.13)
per crescere linearmente nel tempo fino alla chiusura degli stampi
(linea rossa, figura 3.13) con costante di proporzionalita` che viene ot-
timizzata per ciascuna prova sulla base della variazione di temperatura
rilevata nello stampo nel tempo considerato. L’andamento lineare e`
stato scelto in quanto per distanze inferiori almillimetro e per tempera-
ture inferiori ai 700 ◦C la convezione domina rispetto all’irraggiamento
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[5]. Pertanto l’andamento del coefficiente di scambio termico convet-
tivo si puo` considerare seguire quello del fattore di vista tra i corpi.
I dati di output della simulazione dell’approccio sono:
• campo termico del campione;
• campo termico degli stampi;
Gli output sono utilizzati come dati di input nell’esecuzione della sim-
ulazione per l’identificazione.
4.1.3 La simulazione per l’identificazione
La simulazione per l’identificazione ha inizio nell’istante di chiusura
degli stampi e prosegue fino al completo raffreddamento del campione
(raggiungimento della temperatura di circa 200 ◦C) per un tempo vari-
abile a seconda del materiale dello stampo. Il campione e` in contatto
completo con gli stampi, scambia calore con questi attraverso le due
superfici piane e scambia calore con l’aria per convezione e irraggia-
mento attraverso il suo bordo laterale.
Il HTC e` costante (figura 3.13), in quanto la sua dipendenza dalla dif-
ferenza di temperatura tra stampi e campione non viene considerata, in
quanto la dipendenza delHTC dalla temperatura e` piu` debole rispetto
a quella dalla pressione [5]: cio` rende qualitativamente peggiore la
corrispondenza tra curva di temperatura simulata e rilevata, ma for-
nisce dei risultati piu` generali, non influenzati da eventuali assunzioni
riguardo la legge di variazione del HTC rispetto alla temperatura con-
siderata (solitamente lineare).
Il HTC e` stato introdotto come parametro della simulazione inserendo
tra stampo e campione un piano fittizio di spessore e inerzia termica
nulli, cui e` associata una resistenza termica specifica: il piano si com-
porta di fatto come una resistenza termica superficiale, che rappresenta
l’inverso delHTC. L’elemento “piano ”utilizzato e` chiamato Thin Ther-
mally Resistive Layer [60].
4.1.4 Il confronto tra i modelli utilizzati
Il primo modello, che descrive in dettaglio la geometria di stampi e
campione, e` stato utilizzato soprattutto in fase di progettazione della
prova per valutare gli effetti degli accorgimenti tecnici adottati sulla
distribuzione del campo termico negli stampi e sulle rilevazioni delle
termocoppie.
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La presenza delle cave e delle termocoppie e` stata considerata in-
serendonei fori unmateriale ceramico con resistenza superficiale lungo
la superficie cilindrica nulla. Il materiale, che ha le proprieta` fisiche
della guaina delle termocoppie, riempie i fori fino a 3mm dal fondo
cava. I filamenti della termocoppia non sono stati considerati, rite-
nendo trascurabile la loro capacita` termica.
L’elevato tempo di calcolo del modello 3D ha suggerito una sua sem-
plificazione: per prima cosa si e` effettuata un’analisi di sensibilita` della
risposta del modello alla presenza delle cave. L’analisi e` stata condotta
sui 4 materiali utilizzati per gli stampi, utilizzando come HTC i valori
identificati (con una procedura grezza e non automatizzata) sul mod-
ello 3D.
Il modello 3D semplificato considera l’esatta geometria del campione,
mentre riduce quella degli stampi non considerando la presenza delle
cave e delle termocoppie. Questa semplificazione, seppur forte, non
comporta gravi imprecisioni nel modello, mantenendo a parita` di con-
dizioni lo scostamento della temperatura simulata al punto di rile-
vazione A entro il 4% (figura 4.3).
La differenza tra i risultati dei due modelli (Figura 4.4) e` dovuta alla
riduzione dell’infittimento della mesh dovuto alla rimozione di fori e
termocoppie: a fronte di una riduzione non significativa dei tempi di
calcolo, si ottengono risultati di qualita` inferiore. Infittire la mesh nel
modello 3D semplificato comporta l’aumento dei tempi di calcolo ed
il raggiungimento di risultati analoghi a quelli del modello completo.
Cio` ha suggerito la creazione di un modello 2D a geometria definita
dalla sezione sul piano di simmetria trasversale del modello 3D sem-
plificato. Nel modello 2D la mesh e` molto fitta, pur con un numero
di elementi decisamente basso rispetto ai due modelli 3D ed i risul-
tati sono assolutamente confrontabili con quelli del modello 3D piu`
dettagliato (Figura: 4.4).
4.1.5 Confronto tra l’efficienza numerica dei modelli.
I modelli considerati hanno tempi di risoluzione molto diversi, dipen-
denti dal numero di elementi della mesh e dai gradi di liberta` ad essi
associati. Il confronto proposto e` basato sui tempi di simulazione mis-
urati su una piattaforma di calcolo Intel Core Duo Processor T2500,
1.98 GB di memoria RAM e frequenza di clock di 2 GHz.
Dai dati riportati in tabella emerge che il tempo di calcolo per la
risoluzionedelmodello 2D sono estremamente ridotti, tantoda rendere
56 4 Identificazione tramite analisi inversa agli elementi finiti
Fig. 4.1. Confronto tra le mesh dei modelli.
Fig. 4.2. Confronto tra i modelli per il flusso totale sulla sezione di misura nell’istante di
raggiungimento della temperatura massima alla termocoppia centrale.
Table 4.1. Analisi dell’efficienza dei modelli numerici
modello 3D modello 3D modello 2Dsemplificato
n◦ di gradi di liberta` 312087 249331 30233
n◦ di elementi 199581 156508 14480
n◦ di punti della mesh 44794 36437 7878
tempo di simulazione [s] 2315 1798 34
la simulazione utilizzabile all’interno di un ciclo di ottimizzazione. La
simulazione 3D semplificata non presenta invece sostanziali vantaggi
rispetto alla 3D estesa. La procedura di identificazione presentata nella
Sezione che segue richiede un numero minimo di 8 simulazioni per
ciascun test: appare chiaro che l’adozione del modello 2D e` necessaria
4.2 L’analisi inversa 57
Fig. 4.3. Confronto tra i modelli per il campo termico sulla sezione di misura nell’istante di
raggiungimento della temperatura massima alla termocoppia centrale.
Fig. 4.4. Confronto tra i modelli per l’evoluzione della temperatura al punto di rilievo A
(Figura 3.11).
per rendere accettabili i tempi di calcolo senza pregiudicare la qualita`
dei risultati.
4.2 L’analisi inversa
L’analisi inversa agli elementi finiti e` condotta ricercando il valore di
HTC che rende minimo lo scostamento tra la curva di temperatura
simulata e rilevata alla termocoppia centrale. Il problema di minimiz-
zazione richiede la definizione di una funzione obiettivo, la definizione
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di undominiodi ricerca delHTC e l’adozionedi una tecnica robusta per
la ricerca del minimo assoluto, evitando minimi relativi che si potreb-
bero presentare.
Il dominio di ricerca e` individuato sulla base di considerazioni fisiche
pertinenti lo scambio di calore: la sua entita` condiziona significativa-
mente i tempi di ottimizzazione.
La funzione obiettivo ha una formulazione semplice: e` pari allo scarto
quadratico medio tra la curva di temperatura rilevata dalla termocop-
pia centrale e quella simulata.
L’analisi inversa e` stata preceduta da un’analisi di robustezza, condotta
in fase di progettazione dei test, che qualifica le misure effettuate come
idonee ad essere utilizzate per l’analisi inversa.
4.2.1 L’analisi di robustezza
La robustezza dell’analisi inversa e` stata verificata attraverso il calcolo





dove e e` la distanza tra punto di misura e superficie di contatto, ∆t e`
l’inverso della frequenza di acquisizione dei dati e d e` la diffusivita`





Secondo l’analisi di Fourier, l’analisi inversa e` robusta ed affidabile
se il numero di Fourier F0 e` compreso tra 1 e 0.01: come si puo` vedere
in tabella 4.2 la termocoppia centrale fornisce, per ciascun materiale
considerato, dati utilizzabili per l’analisi inversa,mentre lemisure delle
termocoppie laterali hanno grado di affidabilita` minore e non adatto
all’analisi inversa.
4.2.2 Il dominio di ricerca
Il dominio di ricerca del HTC ha come estremo minimo i 50W/m2/K,
che e` il coefficiente di convezione naturale in aria tra due pareti piane
e parallele adiacenti non a contatto. Il limite superiore e` individuato
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Table 4.2. Analisi di Fourier
acciaio allumina macor zirconia p.s.
K [ W(mK) ] 22 20 1.46 2.5
C [ J(KgK) ] 450 510 790 400




−6 1.02E−5 7.33E−7 10.4 × 10−6
dt [s] 0.01 0.01 0.01 0.01
F0-A 0.3096 0.3872 0.0293 0.0412
F0-B 7.74E−2 9.68E−2 7.33E−3 1.03E−2
F0-C 3.44E−2 4.30E−2 3.26E−3 4.57E−3
confrontando la resistenza termica offerta dal HTC con quella dovuta
al materiale dello stampo che separa la superficie di contatto col cam-
pione dal punto di rilievo della temperatura: raggiunto un certo valore
di HTC, la resistenza termica ad esso dovuta e` talmente bassa se con-
frontata con quella offerta dal materiale che il suo effetto sulla curva di
temperatura alla termocoppia centrale e` trascurabile. Le resistenze ter-
miche relative alHTC ed almateriale di separazione della termocoppia
di rilevazione dal piano di contatto sono poste in serie e possono essere









Rtt = RK + RHTC (4.5)
(4.6)
Per acciaio e allumina, fissando il limite di sensibilita` al HTC al 10 %,
si ha:
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K = 20
W
m ∗ K (4.7)
l = 5E − 4m (4.8)












mentre per macor e zirconia p.s., si ha:
K = 2
W
m ∗ K (4.12)
l = 5E − 4m (4.13)












Per stampi in acciaio e allumina il dominio di ricerca del HTC va
dai 50W/m2/K ai 800000W/m2/K; per stampi in macor e zirconia p.s. il
campo di esistenza delHTC va invece dai 50W/m2/K ai 80000W/m2/K.
L’estremo superiore del dominio di ricerca del HTC e` individuato at-
traverso una considerazione che riguarda la resistenza termica totale:
la Figura 4.5 mostra come per valori piuttosto bassi (se confrontati con
l’ampiezza del dominio di ricerca) diHTC la resistenza termica totale in
corrispondenza del punto di rilievo della temperatura A (Figura 3.11)
e` altamente influenzata da esso, mentre per valori maggiori l’incidenza
della resistenza termica relativa al HTC sulla resistenza termica totale
e` molto limitata. Cio` suggerisce di esplorare il dominio di ricerca del
minimo concentrando le osservazioni a valori bassi di HTC, in quanto
per valori alti la sensibilita` della resistenza termica totale e quindi della
curva di temperatura rilevata nel punto A alle variazione del HTC e`
molto limitata.
Nella Sezione 4.2.4 si potra` apprezzare come l’efficienza dell’algoritmo
di ottimizzazione sia nettamente migliore nel dominio della resistenza
termica totale piuttosto che in quello del HTC.
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Fig. 4.5. Andamento della resistenza termica totale al punto di misura A rispetto al HTC.
4.2.3 La funzione obiettivo
La funzione obiettivo puo` essere piu` o meno complessa, si possono
introdurre dei pesi attraverso i quali enfatizzare l’importanza di alcuni
termini rispetto ad altri, oppure si puo` optare per una formulazione
semplice che renda la tecnicadi ottimizzazionemaggiormenteflessibile
e permetta un’identificazione robusta rispetto alla procedura di test se-
guita.
La funzione obiettivo e` definita come lo scarto quadratico medio nor-
malizzato rispetto alla temperaturamassima raggiuntadalla termocop-
pia centrale, tra la curva di temperatura simulata e rilevata in posizione
A (Figura 3.11), ed e` calcolata su un tempo pari ad 1.5 volte il tempo
di raggiungimento (tmax) della temperatura massima (Tmax). Nel caso
di stampi in acciaio e allumina questo tempo e` di circa 4 s, mentre per
macor e zirconia p.s. e` di 15 s: in questo intervallo di tempo si verifica
un progressivo aumento della sensibilita` del modello alle condizioni
impostante sui bordi dello stampo (convezione), che rende l’analisi in-
versa poco robusta per tempi superiori.
Lo scarto quadraticomedio tra le due curve e` calcolato come il quadrato
della differenza tra temperatura rilevata e simulata nel medesimo is-
tante di tempo, normalizzato sull’intervallo temporale considerato. In
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formule, derivate dalla 2.16:
Q =
√∑N
i=1 (TRILi − TSi )2
NTmax
(4.17)
Dove N e` il numero di intervalli temporali considerati e Tmax
(espressa in K) e` la temperatura massima rilevata alla termocoppia
centrale.
Fig. 4.6. Calcolo delle differenze tra la temperatura rilevata e simulata.
La differenza tra temperatura rilevata e simulata viene fatta secondo
segmenti verticali (figura 4.6) anziche´ secondo i segmenti di minima
distanza per enfatizzare gli effetti del transitorio iniziale di salita di
temperatura dello stampo.
La funzione Q cosı` definita e` continua sia nel dominio del HTC che in
quello della resistenza termica totale.
4.2.4 L’ottimizzazione
All’interno del dominio di ricerca definito nella sezione 4.2.2 il valore
di HTC ottimo e` individuato secondo un algoritmo di ottimizzazione
basato sulla ricerca del minimo valore della funzione Q definita nella
4.17. Una serie di simulazioni condotte preliminarmente allo sviluppo
dell’algoritmo evidenzia che la funzione Q presenta un minimo unico
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in corrispondenza di valori di HTC molto bassi rispetto all’estensione
del dominio di ricerca (Figura 4.7).




















Fig. 4.7. Andamento tipico della funzione Q nel dominio del HTC.
Per valori elevati di HTC, la resistenza termica totale varia in modo
sostanzialmente trascurabile (Figura 4.5): di conseguenza, la forma
della curva di temperatura in posizione A (Figura 3.11) e` determi-
nata sostanzialmente dalla sola resistenza termica offerta dal materiale
(Figura 4.8).
Queste considerazioni escludono la presenza di eventuali minimi
della funzione Q per valori di HTC maggiori a quello che individua
il primo minimo. Pertanto l’algoritmo di ottimizzazione esplora il do-
minio di ricerca partendo da valori bassi di HTC sfruttando il metodo
della regula falsi, presentato nella Sezione 2.3.3. Il metodo e` utilizzato
con interpolazione di primo grado per valori diHTC inferiori al punto
di minimo (alla destra del minimo della funzione Q, Figura 4.7), e con
interpolazione del secondo ordine quando si dispone di un valore della
funzione Q associato ad unHTCmaggiore del minimo (alla sinistra del
minimo della funzione Q, Figura 4.7).
Il primo valore di HTC tentativo (HTCa, ascissa del punto a,
Fgiura 4.9(a)) corrisponde all’estremo inferiore del dominio di ricerca
(50W/m2/K); il secondo (HTCb), scelto a piacere in un intorno suffi-
cientemente piccolo del primo, e` pari a 70W/m2/K. Il terzo valore di
HTC (HTCc, Figura 4.9(a)) e` individuato, secondo appunto il metodo
della regula falsi, dall’intersezione della retta passante per i primi due
punti considerati con l’asse delle ascisse. Si procede in questo modo
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Fig. 4.8. Confronto tra curva di temperatura rilevata e curve simulate a diversi valori di HTC.
fino ad individuare un HTC i-esimo per cui il valore della funzione Q e`
maggiore rispetto a quello associato al HTC (i-1)-esimo (Figura 4.9(d),
punto f, quarta iterazione).
A questo punto l’algoritmo di ricerca prevede una modifica della tec-
nica di ricerca del minimo, per permettere una piu` veloce convergenza
verso il valore di HTC ottimo. Si confrontano tra loro le ultime quattro
iterazioni eseguite, scegliendo il punto con Q minore (punto e, Figure
4.9(d) e 4.10(a)). Questo punto e i due adiacenti, uno a destra (HTC
minore, punto d) ed uno a sinistra (HTC maggiore, punto f ), vengono
interpolati con un polinomio di secondo grado, l’ascissa del cui ver-
tice (HTCg, Figura 4.10(a)) e` scelta come valore diHTC per l’iterazione
successiva. La procedura si arresta quando la differenza tra il HTC in-
dividuato alla iterazione (k+1)-esima e quello individuato all’iterazione
k-esima e` inferiore a 10W/m2/K.
In termini analitici, si puo` scrivere per le prime iterazioni:
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(a) (b)
(c) (d)
Fig. 4.9.Prime iterazionedell’algoritmodiNewtonmodificato per la localizzazionedelminimo
della funzione Q. 
Q(xk−1) = mxk−1 + q







Q(xk) −Q(xk − 1) (4.18)
La condizione di passaggio dall’intersezione lineare per due punti
all’intersezione parabolica per tre punti e` espressa:
Q(xk+1) > Q(xk) (4.19)
Soddisfatta questa condizione, le iterazioni assumono la forma:
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Q(xk−2) = ax2k−2 + bxk−2 + c
Q(xk−1) = ax2k−1 + bxk−1 + c







αk+1 = −Q(xk−2)x2k−1 +Q(xk)x2k−1 +Q(xk−1)x2k−2 +
Q(xk−2)x2k −Q(xk−1)x2k −Q(xk)x2k−2 (4.21)
βk+1 = −2(Q(xk−2)xk− +Q(xk−2)xk +Q(xk−1)xk−2) +
−2(Q(xk)xk−2 +Q(xk)xk−1 −Q(xk−1)xk) (4.22)
(a) (b)
(c) (d)
Fig. 4.10. Interazioni finali dell’algoritmo di Newton modificato per la localizzazione del
minimo della funzione Q.
4.3 Risultati 67
Fig. 4.11. Dettaglio grafico dell’ultima iterazione con arresto della procedura di ricerca.
Attraverso questa procedura e` sufficiente l’esecuzione dimeno di 10
simulazioni (con tempo di calcolo caratteristico di circa 30 s ciascuna)
per identificare il valore di HTC ottimo per un singolo test.
4.3 Risultati
Dei dati rilevati per ciascun test (Figura 3.17) solamente l’andamento
della temperatura in posizioneA e` utilizzato per l’identificazione. I dati
relativi alle termocoppie B e C sono utilizzati per la stima della qualita`
dell’identificazione: il valore minimo della funzione Q calcolata per la
posizione di rilevamento A e` un indicatore della qualita` del test ese-
guito (corretto approccio del campione tra gli stampi, posizionamento
rapido e preciso, ecc.), mentre la funzione Q calcolata per la posizione
di rilevamento B fornisce un’importante conferma (o smentita) della
qualita` delmodello agli elementi finiti approntato. Si ritiene attendibile
il HTC identificato quando il valore della funzione Q calcolato per la
termocoppia in posizione B e` confrontabile (maggiore di non piu` del
25%) con quello calcolato per la posizione A.
Secondo il piano sperimentale previsto, per ciascun tipo di stampo,
a ciascun livello di pressione, si identificano, attraverso 5 test, 5 valori
diHTC. IlHTC per cui la funzioneQ e`maggiore viene scartato. Gli altri
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Fig. 4.12. Evoluzione dei valori di HTC individuati rispetto al numero delle iterazioni.













Fig. 4.13. Andamento della funzione Q rispetto al numero delle iterazioni.
4 HTC vengono mediati e si ottiene cosı`, per ciascun livello di pres-
sione, un unico valore di HTC che e` fornito corredato dalla deviazione
standard, come riportato in Figura 4.15.
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(a) Stampo in acciaio




















(b) Stampo in allumina




















(c) Stampo in macor




















(d) Stampo in zirconia p.s.
Fig. 4.14. Confronto tra evoluzione del campo termico rilevata e simulata all’interno dello
stampo per 4 test eseguiti con materiali diversi.
A conclusione dei test sperimentali si sono eseguite delle simu-
lazioni utilizzando come dati di input i valori medi rilevati differen-
ziati per ciascun materiale (come riportato in Tabella 4.3), andando a
ricostruire le curve di raffreddamento dei campioni per i 4 casi (ripor-
tate in Figura 4.18).
Dal confronto tra le curve di temperatura rilevate e simulate (Figura
4.14) emerge che per stampi in acciaio e allumina la forma della curva
di temperatura simulata e` molto simile a quella della temperatura rile-
vata. Per stampi in macor e zirconia p.s. si puo` notare come la curva di
temperatura rilevata non abbia un andamento del tutto regolare: cio` e`
probabilmente dovuto all’evoluzione della microstruttura del campi-
one, che potrebbe non essere conforme alle assunzioni adottate (pre-
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(a) Stampo in acciaio























(b) Stampo in allumina





















(c) Stampo in macor



















(d) Stampo in zirconia p.s.
Fig. 4.15.Andamento delHTC in funzione della pressione di contatto con bande di deviazione
standard sui test.
sentate nella Sezione 4.1.1.
Se i test di microdurezza confermano la completa trasformazione
martensitica in corrispondenza della sezione di misura, potrebbero
verificarsi, nelle zone di bordo del campione, delle trasformazioni mi-
crostrutturali non computate nel modello FE. Cio` puo` essere causa
di generazione (piuttosto che di sottrazione) di calore all’interno del
campione, con conseguente manifestarsi di flussi termici ortogonali
al piano di misura. Questi fenomeni, pur peggiorando la qualita`
dell’identificazione dal punto di vista dell’entita` della funzione Q, non
incidono sulla validita` dei risultati ottenuti, come conferma l’accordo
tra lamicrostruttra prevista sovrapponendo le curve di raffreddamento
individuate alle curve CCT (Figure 4.17 e 4.18) e la microstruttura sti-
4.3 Risultati 71





















Fig. 4.16. Confronto tra gli HTC identificati.
mata attraverso le prove di microdurezza (Sezione 3.4.2).
La curva rossa continua (Figure 4.17 e 4.18) rappresenta il limite su-
periore della velocita` di raffreddamento oltre quale la microstruttura
finale del pezzo non e` completamentemartensitica. Le curve di raffred-
damento ricostruite, stando tutte a sinistra rispetto alla rossa continua,
confermano che i campioni stampati devono avere struttura marten-
sitica.
acciaio allumina macor zirconia p.s.
HTC W/m2/K 4000 1400 300 700
T stampi ◦C 30 30 30 30
T campione ◦C 1000 1000 1000 1000
Table 4.3. Dati di input “normalizzati”per le simulazioni.
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Fig. 4.17. Curve CCT per lo Usibor 1500P R©, fornite da Arcelor.
Fig. 4.18. Curve di raffreddamento ricostruite dal modello FE per i 4 materiali dello stampo
confrontate con la curva di raffreddamento di 27K/s.
5Identificazione analitica
Di seguito sono proposte due tecniche di identificazione analitica del
coefficiente di scambio termico: la prima si basa sulla modellazione
analogica del problema con risoluzione del circuito elettrico equiva-
lente, mentre la seconda sfrutta l’equazione dello scambio termico per
corpi a resistenza interna nulla. La prima tecnica puo` essere adottata
per i test condotti, in quanto si basa su grandezze rilevate dal sistema
in uso, mentre la seconda e` riportata per rendere possibile il confronto
tra i risultati ottenuti ed altri presenti in letteratura (per il solo caso
degli stampi in acciaio).
Ciascuna tecnica risolve in modo esatto equazioni che descrivono, in
modo approssimato, il fenomeno dello scambio termico che interviene
tra stampi e campione: il risultato di queste identificazioni dipende
dall’effettivo realizzarsi delle assunzioni fatte per rendere il problema
risolvibile in forma analitica.
La prima tecnica presentata identifica il HTC sulla base della mis-
urazione del tempo trascorso dall’istante di contatto stampo-campione
all’istante in cui la temperatura rilevata dalla termocoppia centrale
raggiunge il suo massimo. L’analogia elettrica permette uno studio
a parametri concentrati del problema termico e la sua attendibilita` e`
vincolata all’ assunzione di flusso monodimensionale del calore in cor-
rispondenza del punto di misura.
La seconda tecnica, gia` descritta nella Sezione 2.3.1, e` stata utilizzata
da altri autori [17] per identificare il HTC nello stampaggio di lamiere
in acciaio al boro rivestito: la tecnica non e` applicabile alla tipologia
di test descritto in questo lavoro, ma i risultati ottenuti in passato con
questa tecnica possono essere confrontati con quelli presentati nella
Sezione 4.3.
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5.1 L’analogia elettrica
Grazie all’adozione del metodo analogico, le leggi di Fourier e della
continuita` chedescrivonounproblema termico in regimenon stazionario
trovano soluzione attraverso la risoluzione delle equazioni di Ohm e
di Coulomb che descrivono il transitorio del circuito elettrico equiva-
lente. L’analogia tra leggi che descrivono un circuito elettrico e leggi
che descrivono il trasporto di calore implica di stabilire delle analogie
tra grandezze elettriche e grandezze termiche, come riportato in tabella
5.1.
Gr. termica Gr. elettrica
temperatura differenza di potenziale
flusso termico corrente elettrica
resistenza termica resistenza elettrica
capacita` termica capacita` elettrica
Table 5.1. Analogia tra grandezze termiche ed elettriche.
La potenza del metodo analogico risiede nella possibilita` che offre
di discretizzare un problema termico anche complesso, permettendo la
risoluzione semplificata dello stesso.Un tipico esempio di applicazione
del metodo analogico e` quello della modellazione delle pareti multi-
strato, in cui la risposta termica della parete e` individuata risolvendo il
circuito elettrico costruito associando a ciascuno strato una resistenza
ed una capacita` elettriche [21].
Nel caso dell’identificazione proposta, il modello elettrico equivalente
risulta semplice: cio` permette un’identificazione immediata del HTC,
con un impiego di strumenti di misura ed informatici molto semplici
ed economici (non vengono utilizzati i dati rilevati dalla termocamera
ed il calcolo delHTC ottimo puo` essere effettuato in pochi millesimi di
secondo con un foglio di calcolo).
5.1.1 Il modello elettrico
Il problemadello scambio termico tra campione e stampi e` statomodel-
lato secondo l’analogia termoelettrica proposta in Figura 5.1. Ilmodello
presuppone che il flusso termico in corrispondenzadel punto dimisura
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sia monodimensionale. Questa assunzione ha validita` locale limitata
al punto di misura A (Figura 3.11), mentre per i punti di misura B e
C, piu` vicini al bordo del campione, questa assunzione non e` corretta.
Pertanto l’identificazione analitica sfrutta il solo dato rilevato dalla ter-
mocoppia centrale: cio` semplifica la procedura di identificazione e la
rende molto snella, sia dal punto di vista di rilevazione che di elabo-
razione dei dati, ma rende di fatto impossibile impostare un metodo
rigoroso di qualificazione dei risultati ottenuti.
Fig. 5.1. Analogia elettrica.
Il condensatore, posto in corrispondenza del punto di misura cen-
trale (posizione A, Figura 3.11), ha capacita` pari alla capacita` termica
totale della porzione di materiale che separa la termocoppia dalla su-
perficie di scambio termico, data dalla formula 5.1.
CC = Cs ρ e (5.1)
La resistenza termica offerta dalla porzione di materiale che separa il
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Table 5.2. Capacita` e resistenze degli stampi in corrispondenza dei punti di misura.
acciaio allumina macor zirconia p.s.
A CC [
J
(m2K) ] 1744 982 995 1208
Rk [ sK(J) ] 74 105 1370 800
La caricadel condensatorenelmodello elettrico corrispondeall’innalzamento
di temperatura nel sistema termico. Il tempodi carica completa del con-
densatore, equivalente al tempo di raggiungimento della temperatura
massima, e` pari a tre volte la costante di tempo del sistema (tc, Figura
5.1). A ciascun punto di rilievo della temperatura (A, B, C, Figura 3.11)
Fig. 5.2. Tempo di raggiungimento della temperatura massima in posizione A.
In formule:
tm = tmax − t1 (5.3)
tm = 3 ((RHTC + Rk) CC) (5.4)
dove Rk e CC sono dati in tabella 5.2 e tm e` misurato in ciascuna prova
(Figura 5.2).
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Il valore di HTC puo` essere cosı` calcolato attraverso la formula:
HTC =
3 ρ C e k
k tm − 3 ρ C e2 (5.5)
5.1.2 Risultati
La dispersione dei valori di HTC identificati col metodo analogico e`
relativamente contenuta (Figura 5.3) e l’andamento della curvaHTC vs
P e` in linea con i risultati presenti in letteratura [62], [50], e con quelli ril-
evati col metodo dell’analisi inversa. L’identificazione e` stata condotta
unicamente sulla termocoppia centrale, in quanto i risultati ottenuti
per le termocoppie laterali non sono attendibili. Cio` si deve al fatto
che il modello elettrico e` monodimensionale, e questa condizione, nel
test reale, si perde allontanandosi dalla superficie d’interfaccia stampo-
campione.
Il metodo dell’identificazione analitica, vista la sua estrema sem-
plicita`, si propone quindi come una alternativa all’analisi inversa
per test comparativi tra gli HTC, mentre l’attendibilita` ridotta e co-
munque non quantificabile dei sui risultati ne scoraggia l’impiego per
l’identificazione del HTC.
La forza del metodo presentato in questa Sezione e` la sua sem-
plicita`: per il rilevamento dai dati necessari all’identificazione non oc-
corrono strumenti dimisuraparticolarmente sofisticati,ma e` sufficiente
una termocoppia ed un sistema di acquisizione adeguato. Per la parte
di calcolo relativa all’identificazione, il procedimento e` estremamente
semplice e sfrutta una formula analitica: rispetto all’analisi inversa
(termocamera, software FE su tutti), l’identificazione analitica si pro-
pone come valido strumento comparativo, utile per un utilizzo tecnico
piuttosto che scientifico.
5.2 Confronto tra i risultati ottenuti
I valori diHTC identificati analiticamente sono diversi rispetto a quelli
identificati per analisi inversa: dai grafici riportati in Figura 5.4 si puo`
apprezzare come gli HTCae (HTC identificati con l’analogia elettrica)
siano, mediamente, maggiori di circa il 30% rispetto agli HTCai. La
presenza di un errore sistematico indica, ragionevolmente, uno scosta-
mento tra il modello utilizzato per l’identificazione ed il fenomeno
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(a) Stampo in acciaio





















(b) Stampo in allumina

























(c) Stampo in macor



















(d) Stampo in zirconia p.s.
Fig. 5.3. Andamento del HTC in funzione della pressione di contatto con bande di deviazione
standard sui test.
reale.
Analizzando il flusso termico per il punto A (Figura 5.5, sulla base
dei dati di Figura 4.2) si apprezza che l’entita` del flusso termico in
direzione normale a quella considerata per la modellazione monodi-
mensionale e` decisamente maggiore a valle rispetto che a monte del
punto A. Per questo motivo la temperatura rilevata alla termocoppia
raggiunge il suo massimo (a parita` di HTC) in tempi minori rispetto a
quelli previsti dal modello monodimensionale.
l’analisi del flusso termico passante per i punti di rilievo della tem-
peratura evidenzia inoltre come l’attendibilita` del modello analogico
sia estremamente sensibile alla distanza dalla superficie di interfaccia
stampo-campione. A dimostrazione di cio`, si puo` apprezzare come i
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Fig. 5.4. Confronto tra gli HTC identificati attraverso l’analogia elettrica.
risultati dell’identificazione analitica condotta sulle termocoppie lat-
erali siano comunque realistici, mentre per l’identificazione tramite
metodo analogico i valori tendano decisamente ad essere troppo ele-
vati.
A conferma della maggior attendibilita` dei risultati ottenuti at-
traverso analisi inversa, la dispersione degli HTCai e` minore rispetto
a quella degli HTCae (Figura 5.7): il maggior numero di dati di in-
gresso disponibili per l’analisi inversa rispetto all’identificazione ana-
litica comporta una soluzione piu` precisa del problema.
5.3 Confronto con i risultati presenti in letteratura
In letteratura (Sezione 2.3.1) i dati disponibili riguardano solamente
stampi in acciaio, ad oggi unico materiale impiegato nella costruzione
di utensili per stampaggio a caldo. L’identificazione analitica utilizzata
dagli autori del lavoro presentato nella Sezione 2.3.1 e` sicuramente
molto piu` raffinata rispetto all’identificazione attraverso analogia ter-
mica, ma presenta delle assunzioni la cui validita` va comunque subor-
dinata alla tecnica di conduzione del test. Innanzitutto l’applicazione
della Equazione 2.11 presuppone flusso termico monodimensionale
in corrispondenza dei punti di misura della temperatura: cio` e` tanto
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Fig. 5.5. Flusso termico passante per il punto di rilevazione della temperatura A.
piu` corretto quanto piu` i punti di misura (sul campione e sugli
stampi) sono vicini all’interfaccia tra i corpi, e quanto piu` le dimen-
sioni del campione ed il posizionamento strategico delle termocoppie
rendono le misure insensibili alle condizioni al contorno (condizioni
di convezione sulle superfici esposte in aria di stampo e campione).
Nell’impossibilita` di verificare la procedura operativa di rilevamento
dei dati per l’identificazione, delle importanti riflessioni per la com-
parazione tra i metodi possono essere fatte basandosi sull’entita` della
deviazione standard associata alle misure.
Alla pressione di contatto di 40MPa, il valore di HTC identificato at-
traverso la tecnica analitica [63] e` di 3000W/m2/K, con una deviazione
standard associata di 1200W/m2/K (Figura 2.5); attraverso l’utilizzo
dell’analisi inversa agli elementi fini il valore diHTC e` di 4100W/m2/K,
con una deviazione standard di 300W/m2/K.
L’andamento delHTC rispetto alla pressione di contatto per l’acciaio e`
in linea con quanto previsto da diversi lavori di letteratura esaminati
[62, 64, 65]: la buona concordanza dei risultati dell’identificazione per
stampi in acciaio e l’entita` della deviazione standard sui dati identifi-
cati, costante (in valore percentuale) per tutti i materiali testati indica
una buona attendibilita` dei valori diHTC identificati anche per stampi
in allumina, macor e zirconia parzialmente stabilizzata.
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(a) Stampo in acciaio

























(b) Stampo in allumina

























(c) Stampo in macor





















(d) Stampo in zirconia p.s.
Fig. 5.6. Confronto tra gli HTC identificati mediante analogia elettrica e mediante analisi
inversa.
Per il processodi stampaggio a caldo tradizionale, la precisionedi stima
del HTC ha importanza tecnologica relativa, in quanto l’utilizzo di
stampi in acciaio raffreddati e` garanzia di un raffreddamento del pezzo
con velocita` benmaggiori dei 27K/s; nelmomento in cui l’affacciarsi sul
mercato di materiali ceramici altamente tecnici apre nuove prospettive
a questo tipo di tecnologia, diviene assolutamente importante deter-
minare il HTC con la massima precisione possibile, al fine di sfruttare
appieno le possibilita` del processo in chiave di produzione di compo-
nenti a microstruttura non martensitica.
82 5 Identificazione analitica
(a) Deviazione standard dei valori
identificati tramite analisi inversa
(b) Deviazione standard dei valori
identificati tramite analisi inversa
normalizzata sui valori identificati at-
traverso l’analisi inversa
(c) Deviazione standard dei valori
identificati tramite analogia elettrica
(d) Deviazione standard dei valori
identificati tramite analogia elettrica
normalizzata sui valori identificati at-
traverso l’analisi inversa
Fig. 5.7. Deviazione standard per le due tecniche di identificazione utilizzate.
6Simulazione di processo
L’analisi del comportamento di stampi in materiali alternativi al
tradizionale acciaioprospettanuovi orizzonti per lo stampaggio a caldo
di lamiere in acciaio al boro. La tecnologia di lavorazione di queste
lamiere, presentata nella Sezione 2.1, orientata alla produzione di com-
ponenti a microstruttura completamente martensitica, puo` arricchirsi
con l’impiego di utensili da stampaggio in materiale ceramico, che
consentono un maggior controllo del raffreddamento del componente
e l’importante possibilita` di ottenere, in modo affidabile, microstrut-
ture non martensitiche. Per comprendere le potenzialita` dei materiali
ceramici, si possono sfruttare i valori di HTC identificati per eseguire
delle simulazioni FE che replicano il processo industriale (e non piu` il
test di laboratorio) e valutare cosı` la gamma di velocita` di raffredda-
mento ottenibili.
La simulazione e` condotta utilizzando stampi in zirconia parzialmente
stabilizzata ed in macor: nonostante le sue proprieta` termiche meno
estreme della prima rispetto a quelle del secondo, il suo utilizzo indus-
triale e` altamente favorevole viste le sue proprieta` meccaniche. Inoltre,
nel corso dei test di laboratorio, il macor ha dimostrato di sopportare
meno bene rispetto alla zirconia p.s. le sollecitazioni termomeccaniche
indotte dallo stampaggio a caldo.
6.1 La simulazione
La simulazione di processo si riferisce a un ipotetico processo stan-
dard: i parametri di input sono stimati attraverso l’analisi del materiale
disponibile in letteratura, riferita all’utilizzo di stampi in acciaio, e at-
traverso delle considerazioni tecnologiche che verranno approfondite
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nei prossimi Paragrafi. Allo stessomodo, per conferire lamassima gen-
eralita` alla simulazione, la configurazione geometrica e` estremamente
semplice e ricalca in parte quella utilizzata per l’identificazione.
Importante ai fini del risultato della simulazione e della sua validita`
tecnologica, e` la scelta della temperatura del materiale dello stampo:
mentre lo stato attuale della tecnologia consiglia il raffreddamento
degli stampi in acciaio per aumentare l’estrazione di calore dal pezzo,
l’impiego di materiali ceramici e la diversa finalita` (microstrutturale)
del processo suggerisce di individuare una temperatura di regimedegli
stampi che sia compatibile con il processo e che consenta di ottenere il
risultato desiderato.
La temperatura iniziale della lamiera e` scelta in linea con quelle
tipiche riportate in letteratura [66], in accordo con quelle utilizzate
per l’identificazione: cio` permette l’utilizzo dei dati di HTC identifi-
cati per la simulazione di processo ed un confronto dei risultati della
simulazione con quelli presenti in lavori simili.
6.1.1 La configurazione geometrica
La simulazione e` condotta su una lamiera dello stesso materiale e
spessore del campione utilizzato e con stampi in materiale (macor e
zirconia p.s.) identico a quello utilizzato per l’identificazione del HTC.
Anche la configurazione geometrica scelta ricalca quella proposta per
i test di identificazione: viene eseguita una compressione omogenea
della lamiera all’interno della finestra di pressione applicata consider-
ata nell’identificazione. Questi accorgimenti permettono di utilizzare
le leggi di comportamento deimateriali individuate in letteratura e ver-
ificate attraverso l’identificazione, e di utilizzare i parametri numerici
(dimensione della mesh, tolleranza sul contatto, ecc . . . ) individuati
nelle simulazioni preliminari all’identificazione.
In letteratura sono presenti molti lavori dedicati alla simulazione nu-
merica dei processi di stampaggio a caldo della lamiera [67], molti dei
quali fanno riferimento ad un preciso processo industriale [18]. As-
sumere una geometria standard per tali processi non e` possibile, vista
la varieta` e la complessita` dei componenti prodotti con questa tecnolo-
gia. Lo stampaggio piano e` comunque la configurazione piu` semplice,
dal punto di vista della realizzazione del test, della sua ripetibilita` e
della possibilita` di estendere i risultati a casi diversi.
Si imposta quindi la simulazione su di una lamiera quadrata di lato
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100mm, compressa tra due stampi di uguale estensione e dello spes-
sore di 50mm (Figura:6.1): il rapporto tra capacita` termica della lamiera
e dello stampo e` molto importante, in quanto un valore troppo alto di
questo parametro rende il raffreddamento della lamiera indesirabil-
mente sensibile alle condizioni al contorno impostate sugli stampi.
Fig. 6.1. Geometria del modello utilizzato per le simulazioni di processo.
6.1.2 I materiali
La simulazione e` stata condotta utilizzando due materiali per lo
stampo: la zirconia p. s., che presenta eccellenti proprieta` meccaniche
e proprieta` termiche adeguate allo scopo del suo impiego, ed il ma-
cor, che offre maggiori possibilita` nella progettazione del processo
dal punto di vista termico, ma non appare idoneo meccaniche ad un
impiego come utensile da stampaggio a caldo.
Considerando la “giovinezza”di questi materiali, appare verosimile
che nell’arco di pochi anni si possano trovare tecniche di sinteriz-
zazione in gradodi conferire proprieta` termiche ancora piu` estreme alla
zirconia parzialmente stabilizzata, piuttosto che proprieta` meccaniche
migliori per il macor. I parametri che descrivono il comportamento
termico e meccanico di questi materiali sono stati reperiti in letteratura
e sono riportati nella Sezione 3.3.3 [68].
La simulazione non e` condotta su stampi in allumina ed acciaio:
la prima, pur essendo un materiale ceramico, non offre prestazioni
significativamente differenti rispetto all’acciaio stesso; d’altro canto,
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l’impiego dell’acciaio in un processo la cui finalita` e` produrre compo-
nenti a microstruttura dolce rispetto a quella martensitica (ferritico-
perlitica o ferritico-bainitica) non ha, attualmente, ragione d’essere.
6.1.3 I parametri di input
I parametri di input della simulazione sono:
• temperatura iniziale della lamiera;
• temperatura iniziale degli stampi;
• HTC;
La simulazione e` eseguita inserendo come dati di input i valori
caratteristici riscontrabili nel processo industriale, gli stessi utilizzati
come riferimento per l’identificazione: la temperatura della lamiera
nell’istante di chiusura degli stampi e` di 1000K, ed gliHTC sono quelli
identificati alla pressione di 20MPa e riportati in Tabella 6.1.3.
macor zirconia p.s.
HTC W/m2/K 300 700
T stampi ◦C 200 200
T campione ◦C 1000 1000
Table 6.1. Dati di input delle simulazioni di processo.
La temperatura iniziale degli stampi e` scelta sulla base di consid-
erazioni tecnologiche riguardanti il processo. La pratica industriale
attuale prevede l’utilizzo esclusivo dell’acciaio come materiale per gli
stampi e persegue l’ottenimento di elevate velocita` di raffreddamento:
gli stampi vengono raffreddati e mantenuti a temperatura ambiente
(o quasi). Nell’ottica di una progettazione del processo finalizzata alla
riduzione delle velocita` di raffreddamento della lamiera con impiego
dei materiali ceramici per gli stampi, e` desiderabile una temperatura
degli stampi sufficientemente elevata, funzionale appunto ad un raf-
freddamento lento el pezzo. D’altro canto la temperatura degli stampi,
a regime, non puo` superare il valore di circa 200 ◦C, dettato dalle esi-
genze di estrazione del pezzo.
Escludendo, in questa fase, la possibilita` di riscaldare gli stampi per
rallentare il raffreddamento del pezzo, e` stata condotta un’analisi del
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ciclo termico cui gli stampi sono sottoposti per determinare la temper-
atura che essi assumono a regime. I dati di letteratura [18], riguardanti
stampi in acciaio, mostrano un andamento (rilevato) sinusoidale della
temperatura all’interno dello stampo, che tende, dopo un numero pi-
uttosto esiguo (10) di cicli di stampaggio ad assestarsi attorno al valore
di 500K.
In proposito, e` stata condotta una simulazione (monodimensionale con
stampi in zirconia p.s., Figura 6.2) in cui lo stampo viene sottoposto a
dei cicli termici che simulano quelli reali. Con riferimento alla Figura
6.2, il coefficiente di convezione impostato sull’estremita` destra del
segmento blu (che rappresenta lo stampo, del quale ha le proprieta`
termiche) e` di 50W/m2/K. L’estremita` sinistra dello stesso segmento e`
posta in contatto con il segmento rosso (che rappresenta la lamiera,
della quale ha le proprieta` termiche), posto alla temperatura iniziale
di 700 ◦C. I due segmenti rimangono a contatto per 10 s, dopodiche´ il
segmento rosso viene rimosso e sull’estremita` destra del segmento blu,
esposta in aria, vengono applicati per 10 s un coefficiente di scambio
termico convettivo di 50W/m2/K ed un’ emissivita` di 0.9 [69]. Questo
ciclo viene ripetuto 100 volte, rilevando istante per istante la temper-
atura su 4 punti disposti sul segmento blu a distanze dall’estremita`
sinistra di 10-20-30-50mm (Figura 6.3).
Fig. 6.2. Rappresentazione del ciclo termico di stampaggio semplificato.
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Fig. 6.3. Andamento delle temperature all’interno dello stampo all’aumentare del numero di
cicli di stampaggio.
6.2 Risultati
Le curve di raffreddamento individuate sono state sovrapposte alle
curve CCT fornite da Arcelor per l’Usibor 1500P R©. Per la valutazione
della microstruttura finale del pezzo le curve sono state modificate in
accordo con i dati riportati in letteratura [70]: lo stato di sforzo indotto
nella lamiera nella pratica industriale come nella simulazione eseguita
causa uno spostamento verso sinistra delle curve CCT di circa 5K.
Il raffreddamento della lamiera, riportato nelle Figure 6.4, 6.5, 6.6 per
lo stampo in zirconia p.s., evidenzia che per poter estrarre il pezzo ad
una temperatura prossima ai 200 ◦C e` necessaria una permanenza in
stampo di poco piu` di due minuti.
Il profilo di discesa di temperatura del campione 6.7 per lo stam-
paggio con il macor e` abbastanza lento da tagliare la zona della trasfor-
mazionebainitica, ottenendouncomponentefinaledalle caratteristiche
microstrutturali radicalmente diverse rispetto al processo di stampag-
gio a caldo tradizionale.
L’utilizzo della zirconia p.s. come materiali per gli stampi induce un
raffreddamento leggermente piu` rapido, ed il confronto con le curve
CCT non offre garanzie riguardo la microstruttura del pezzo ottenuto.
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Fig. 6.4. Campo termico di stampo (zirconia p.s.) e lamiera dopo 1 s dal contatto.
Fig. 6.5. Campo termico di stampo (zirconia p.s.) e lamiera dopo 10 s dal contatto.
Dal confronto tra i risultati delle simulazioni, il HTC, il peso specifico
del materiale, la capacita` termica specifica e la conducibilita` termica
specifica sono i parametri del materiale dello stampo che regolano
il raffreddamento del pezzo. In particolare per il caso della zirconia
p.s., un’ulteriore diminuzione della sua conducibilita` comporterebbe
l’ottenimento di velocita` di raffreddamento particolarmente basse.
L’interesse maggiore che possono rappresentare i materiali ceramici
comemateriali per lo stampaggio a caldo, e` sicuramente il loro impiego
non come utensili integrali, ma come inserti, da posizionare strategi-
camente nello stampo, in tradizionale acciaio. Questo tipo di impiego
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Fig. 6.6. Campo termico di stampo (zirconia p.s.) e lamiera dopo 2min. dal contatto.
e` subordinato al fatto che inserti e stampi abbiano delle deformazioni
termiche indotte simili, e tali da non pregiudicare il funzionamento
dello stampo (sforzi di trazione sullo stampo, piuttosto che fessur-
azioni all’interfaccia stampo-inserto): in questo senso, un confronto tra
i coefficienti di dilatazione termica lineare di acciaio (13.3E− 6), macor
(9.3E− 6) e zirconia p.s. (10.4E− 6) incoraggia lo sviluppo di questi tipi
di utensile.
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Fig. 6.7. Curve di raffreddamento per stampi in macor e zirconia p.s. a temperatura di regime
sovrapposte alle curve CCT.

7Conclusioni
Ad oggi il processo di stampaggio a caldo delle lamiere al boro e` con-
dotto unicamente con stampi in acciaio ed e` finalizzato alla produzione
di componenti a microstruttura martensitica. Lo sviluppo, recente, di
materiali ceramici dalle elevatissime prestazione meccaniche ha sug-
gerito lo svolgimentodi questo lavorodi tesi. Primadella progettazione
di un test per la qualificazione dell’impiego di questi materiali come
utensili per lo stampaggio a caldo, sono state analizzate le metodolo-
gie di determinazione del HTC nei processi industriali di formatura
della lamiera e massiva. L’obiettivo di approntare un test semplice e
ripetibile e` stato raggiunto, proponendo due soluzioni: la prima, basata
sull’identificazione delHTC tramite analisi inversa agli elementi finiti,
offre risultati precisi ed accurati, presentando pero` un complessita` di
rilevamento e di elaborazione dei dati che la rendono piu` appetibile
per un impiego in campo scientifico ed accademico piuttosto che in-
dustriale. La seconda tecnica, basata sull’applicazione del metodo ana-
logico, e` estremamente adatta adun’applicazione in campo industriale:
i risultati, affetti da un errore sistematico dovuto alla schematizzazione
monodimensionale introdotta, presentano notevole ripetibilita` e sem-
brano particolarmente adatti a test comparativi sui materiali.
I test condotti hanno evidenziato l’importanza del materiale (acciaio,
allumina, macor, zirconia parzialmente stabilizzata) dello stampo sul
valore di HTC che si riscontra all’interfaccia con la lamiera e soprat-
tutto sulla velocita` di raffreddamento della lamiera stessa. Per stampi
in macor e zirconia p.s. si prospetta la possibilita` di un impiego per
la produzione di componenti a struttura mista bainitico-martensitica.
La possibilita` reale di sfruttare industrialmente i materiali ceramici
prefigura addirittura l’opportunita` di realizzare in un unica stazione
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di stampaggio dei componenti con gradiente microstrutturale grazie
all’impiego di utensili con inserti in ceramico posizionati nelle zone in
cui si desidera rallentare il raffreddamento.
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